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ABSTRACT

Rupp, Kortney Kaye. M.S., Purdue University, August 2016. Polymerizable Lipids for
Controlled Functionalization of Layered Materials. Major Professor: Shelley A. Claridge.

Self-assembled monolayers (SAM’s) offer a straightforward approach to tailoring
the interfacial properties of metals, metal oxides and semiconductors. Noncovalent
functionalization of single-layer graphene offers the possibility to finely tune surface
chemistry for future applications in electronics. Polymerization of photochemically
reactive molecules in a lying-down phase has been used to increase the strength of
intermolecular interactions between long alkanes and HOPG substrates. Long-chain fatty
acid derivatives with internal diyne groups yield a conjugated ene-yne polymer upon UV
irradiation. Diyne lipids with phosphocholine (diyne PC) and phosphoethanolamine (diyne
PE) groups offer a charged form of the head group that is robust towards solvents and
contain photopolymerizable diyne groups within the acyl chains. The orientation of
polymerizable phospholipids on HOPG was assessed by matching dimensions from AFM
images of the observed lamellar features. Molecular modeling provided insight into the
interactions occurring between head groups and tail groups along with presenting ideas
about the molecular alignment of the lipids on the HOPG substrate, before and after
polymerization. The films were assessed for solvent stability and for the ability to template
deposition of other small molecules.
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CHAPTER 1. CONTROLLED DEPOSITION AND CHARACTERIZATION OF
POLYMERIZABLE DIYNE-FUNCTIONALIZED LIPIDS

1.1 Introduction
Two-dimensional (2D) materials are an increasingly important focus in materials
research due to the unique physical phenomena that occur when energy transport is
confined within a plane.1 Graphene is an excellent electronic and thermal conductor.2,3
Additionally, because all atoms in single-layer graphene are surface atoms, the properties
and reactivity strongly depend on the graphene sheet’s local electronic environment and
mechanical deformations.1 Intensive work has resulted in the development of multiple
routes to the controlled synthesis of epitaxial and non-epitaxial graphene on a variety of
surfaces making it a versatile platform for fabrication of interfaces for use in biomedical
devices, electronics and semiconductors.4 Pristine graphene does not allow for covalent
modification without interruption of its continuous π orbital system.5 Noncovalent
functionalization offers the opportunity to tune the properties of graphene without
disrupting π conjugation and has motivated interest in interfacing functional molecules
while identifying a host of applications ranging from conductors to transistor-like
devices.6,7
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Self-assembled monolayers offer a straightforward approach to tailoring the
interfacial properties of metals, metal oxides and semiconductors. The formation of selfassembled monolayers (SAMs) of alkanethiols on gold from Whitesides, Nuzzo and Allara
in the 1980s8-11 forms the basis of synthetic monolayer chemistry. A combination of
molecule-substrate interactions, van der Waals interactions and a terminal functional group
that influences solvent wetting properties contributes to the formation of standing-up
phases (Figure 1.1) of alkanethiol monolayers.12
Highly oriented pyrolytic graphite (HOPG) has an atomically flat surface and does
not form covalent bonds to common functional groups but can be used as a substrate for
monolayers in which the lowest-energy adsorption geometry forms π-stacking
interactions13-18 with aromatic groups or long alkanes.19,20 Functionalization and
polymerization of photochemically reactive molecules in a lying-down phase has been used
to increase the strength of intermolecular interactions between long alkanes and HOPG
substrates.21,22 Long-chain fatty acid derivatives with internal diyne groups yield a
conjugated ene-yne polymer upon UV irradiation.23,24

3

Figure 1.1 Routes to self-assembly of standing and lying down phase monolayers.

Polymerizable lipids in 3:2 Hexane/isopropanol, self-assemble into lamellar
structures capable of creating ordered patterns (Figure 1.2), which photopolymerize when
irradiated with UV light (254 nm). Once electronically excited, the diacetylene functional
group forms a diradical which then attacks the neighboring monomers (within 4 Å)
undergoing a 1,4 addition reaction25,26 to become a dimer radical. The dimer radical will
then attack the next set of neighboring diacetylene monomers to propagate polymerization.
Polymerization in phospholipid monolayers deposited on HOPG can only form a link to an
available monomer on either side, leading to the formation of a linear polymer (Figure 1.2).
The result is a horizontally oriented monolayer of polymerized phospholipids that are
epitaxially aligned along the graphite basal plane, conferring increased solvent stability
(Figure 1.3) 12,27-34.
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Figure 1.2 Polymerization in phospholipid monolayers deposited on HOPG results in
the formation of a linear polymer.

However; initial experiments with monolayers on graphite have determined that
functional groups in proximity to a hydrophobic interface undergo substituted phase shifts,
due to the ability of the interface to stabilize as the charged form of the group.35,36This shift
impacts the chemical behavior of functional groups (e.g. carboxylic acids and
amines),limiting the range of chemical functionality (e.g. ionic groups) that can be installed
and utilized at a layered material interface (e.g. for electronic doping or analyte binding).
To solve this problem a biological model was chosen that displays similar acid-base
chemistry and offers a scaffold architecture that elevates the terminal functional group
above the hydrophobic substrate.
Composition of the cellular membrane is 60-80% glycerophospholipids, whose
chemical structure consists of two long hydrophobic acyl chains connected to a hydrophilic
head via a glycerol backbone. A phosphate group linked to a terminal functional group
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exposed at the solvent interface composes the head group. Diyne lipids with
phosphocholine (diyne PC) and phosphoethanolamine (diyne PE) groups offer a charged
terminal functional group and contain photopolymerizable diyne groups within the acyl
chains. The glycerol backbone offers control over head group orientation and a modest
separation of terminal functional groups and the substrate allow for greater steric access
and increased analyte binding.37,38

Figure 1.3 Horizontally oriented bilayer of polymerized phospholipids are epitaxially
aligned along the graphite basal plane and can form monolayers with increased
solvent stability
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1.2 Characterization of Newly Created Films
Atomic force microscopy (AFM), scanning tunneling microscopy (STM), and other
techniques were used to characterize the assembly and chemistry of the polymerized lipid
interfaces. STM is the only technique capable of detecting the change in molecular
conductivity for this type of polymerization in well-studied carboxylic acids before
(Fig.1.4a) and after (Fig.1.4b) UV irradiation.

d

Figure 1.4 STM images of a) unpolymerized and b) polymerized carboxylic acid

The orientation of several diacetylene derivatives were confirmed using AFM
(Figure 1.5). They are 1,2-bis(10,12-tricosadiynoyl)-sn-glycero-3-phosphoethanolamine
(Figure.1.5a), 1,2-bis(10,12-tricosadiynoyl)-sn-glycero-3phosphocholine (Figure.1.5b),
10,12-nonacosadiynoic acid (Figure. 1.5c), and 10,12-pentacosadiynoic acid (Figure.1.5d).
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Figure 1.5. Chemical structures for a)1,2-bis(10,12-tricosadiynoyl)-sn-glycero-3phosphoethanolamine (diyne PE), b) 1,2-bis(10,12-tricosadiynoyl)-sn-glycero-3phosphocholine (diyne PC), c) 10,12-nonacosadiynoic acid (NCDA) and d) 10,12pentacosadiynoic acid (PCDA).

Self-assembly of commercially available polymerizable phospholipids on HOPG
was assessed by matching dimensions from AFM images (Figure 1.6) including height and
periodicity of the observed lamellar features. Molecular modeling (Figure 1.6a, b) provided
insight into the interactions occurring between head groups and tail groups along with
presenting ideas about the molecular alignment of the lipids on the HOPG substrate, before
and after polymerization. The expected height and period of the diyne PC monolayers are ̴
0.5 nm and ̴ 6 nm, respectively. These are in reasonable agreement with observed values
of ̴ 0.55 nm (Figure 1.6c, d) and ̴ 6 nm (Figure 1.6e, f). Following UV irradiation, AFM
images show the ordered structure remains intact, but structural changes due to
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polymerization are below the spatial resolution of AFM. A highly sensitive method is
required to characterize orientation changes that occur during polymerization.
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a) 23:2 diyne phosphocholine

b) assembly on HOPG

d)

c)

d)

e)

f)

Figure 1.6. a) Structure for diyne PC. b) Model showing a proposed orientation of
diyne PC molecules after polymerization and side-view of diyne PC molecules on
graphene. c) AFM phase image (500 nm) of unpolymerized diyne PC; line scan
values in (d) are extracted from the highlighted area e) Line scan showing height of
monolayer (~ 0.55 nm). f) AFM phase image (200 nm) of unpolymerized diyne PC,
the length of 20 lamellar repeats was used to calculate the period (~ 6 nm).
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AFM has been successful in imaging alkane layers HOPG39-45, as well as
confirming our deposition methods produce well packed monolayers of 4 species
containing a polymerizable diacetylene group. Figure 1.7 contains AFM images of PCDA
(Figure 1.7a), NCDA (Figure 1.7b), diyne PC (Figure 1.7c), and diyne PE (Figure 1.7d),
in three sizes (1 µm, 500 nm and 200 nm). The phase images are shown for Figure 6
because they often provide a better contrast to the lamellar features observed and offer a
clear image of domain formation and the visible striping pattern indicative of self-assembly
on the graphite surface. Using height measurements (Figure 1.7), the period of PCDA,
NCDA, diyne PC and diyne PE was determined (Table 1). When a diyne PC molecule
undergoes polymerization, the height of the polymer backbone is predicted to increase by
0.146 nm.44 This small height change is at the edge of what the AFM utilized in these
experiments is capable of accurately measuring.

Table 1.1 Lamellar periodicities calculated from AFM images in Figure 1.7.a-d.
Monolayer Period (nm)
PCDA

6.6

NCDA

5.2

diyne PC

6.2

diyne PE

5.7
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Figure 1.7. AFM phase images of a) PCDA b) NCDA c) diyne PC and d) diyne PE.
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1.3

Optimizing Polymerization Conditions

To create polymerized monolayers that can withstand exposure to a range of
chemical environments, a polymerization protocol was needed that would result in high
polymerization yield. Previous works on diacetylene films have identified a wide range of
possible polymerization conditions. Polymerization times have ranged from 10 -120
minutes using a 254 nm UV lamp (~1.6 mW/cm2) positioned 5 cm above the sample. The
range used for the experiments discussed in this report is 30-45 minutes. Experiments
studying 2D bilayers in water suggest that above a certain threshold of UV irradiation
polymerization will no longer initiate and will in fact cause degradation of the film.45 No
differences were observed in AFM images of lying down monolayers of diyne PC when
irradiated for 90 minutes compared with the shortened time range of 30-45 minutes.
Decreasing the polymerization time from 90 minutes to 30 minutes streamlined sample
preparation time with no apparent detriment to the quality of our samples.
The relationship between the UV exposure time, number and length of polymers
formed is still unclear. Early work studying 2D polymerization of diyne PC bilayers in
water, initially hypothesized that as time exposed to UV irradiation increases, the
polymerization progresses homogenously within the bilayer.46 The same researchers later
determined that only a brief exposure time is required to initiate polymerization in parts of
a bilayer and indicated the existence of a range of domains with varying molecular
organization. These studies provide a useful model to begin understanding the factors that
affect polymerization efficiency of diyne PC monolayers in air on an HOPG substrate. It
is known that the identity of the substrate and the intermolecular distance of polymerizable
groups greatly affect the polymerization rate.47 Sample preparation methods can heavily
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influence the success of polymerization and have been tightly regulated to produce
consistent surfaces amenable to the formation of large polymers; however, challenges
remain. The described sample preparation method can result in the formation of isotropic
domains ranging in size (up to ~ 500 nm). Surrounding the domains are areas of the surface
where a lower density of molecules is observed, suggesting weakly adsorbed molecules
collect in these areas. The low density areas between domains terminates the
polymerization reaction due to the increased space between bond forming carbons. Thus,
maximizing polymer length will likely be dependent on discovering the parameters
required to maximize the size of domains and minimize the number formed during
deposition.
Scanning tunneling microscopy (STM) has been successful in identifying areas of
the diacetylene film that are polymerized. The ene-yne polymer is observed as brighter
with the STM due to the delocalization of the electrons within the excited π orbitals.48,49
The polymer backbone in STM images appear as apparent protrusions due to both
electronic effects and the lifted-up conformation of the PDA nanowire upon polymerization;
which was previously proposed based on STM data.50 Imaging diyne PC or diyne PE has
been difficult due to the alternating orientation of the two akyl chains in the tail group;
which increases the likelihood that interaction occurs with the STM tip. NCDA and PCDA,
both polymerized and unpolymerized, were successfully imaged by researchers in the
Claridge group using STM, Figure 1 shows STM images of unpolymerized (Figure 1.4a)
and polymerized (Figure 1.4b) NCDA.
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CHAPTER 2. IDENTIFYING PROPERTIES OF AMPHIPHILIC FILMS

2.1 Optimizing Deposition of Films
Initially, lipids were deposited from chloroform (CHCl3), a common lipid solvent.
After exposure to pure chloroform (without lipids) it was discovered that the structure of
the graphite surface is altered, with features that appear to be aligned with the graphite
lattice, suggesting the presence of impurities, or undesired solvent-substrate interactions
(Figure 2.1a). A solvent system was required that would both leave the HOPG substrate
intact and solvate a variety of lipids for self-assembly. A mixture of 3:2 hexane and
isopropanol met these criteria (Fig.2.1b). When lipids were dissolved in the solvent mixture,
lamellar features were observed in AFM images (Fig.2.1c), consistent with formation of a
horizontally aligned monolayer with the lipid backbone parallel to the graphite basal plane
as expected.

Figure 2.1. AFM height images of clean, cleaved HOPG (a) with chloroform, (b) 3:2
hex/IPA and (c) 1,2-ditricosanoyl-sn-glycero-3-phosphocholine.
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Utilizing lying down monolayers as a template for deposition of further material
systems that require chemical orthogonality on this length scale will benefit from
straightforward film preparation strategies that maximize domain sizes. Previous work in
this area has identified two main deposition methods, drop casting and the LangmuirSchaefer (LS) method.1,2 In drop casting, an aliquot of lipid/solvent mixture (e.g. 6 µL of
a 0.015-0.017 mg/mL solution) is dispensed from a micropipette onto a cleaved, heated3
(107°C) HOPG substrate. When the HOPG is unheated (Figure 2.2a) prior to drop casting,
many small domains are observed. When the HOPG is heated (Figure 2.2b) the size of
domains increase. The LS method is capable of producing the highest quality diacetylene
films due to the parameters of monolayer formation it is able to control4,5 but requires more
time and a Langmuir-Blodgett trough. The experiments discussed in this thesis exclusively
use drop casting as the deposition method.

Figure 2.2 a) AFM height image (1 µm) of unheated HOPG with polymerized diyne
PE. b) AFM height image (1 µm) of heated HOPG with polymerized diyne PE.
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Initial experiments utilized well known protocols heating the HOPG substrate at
207°C, followed by diyne PE deposition at a concentration for formation of a single
monolayer (Figure 2.3a). At 207°C, long (> 1 µm) narrow (~ 200 nm) domains form along
with isotropic domains that do not exhibit the lamellar structural characteristic of ordering,
and large vacancies between domains. To maximize substrate coverage, the annealing
temperature was decreased to 107°C and diyne PE deposition concentration increased to
0.017 mg/mL (Figure 2.3b). Heating to 107°C successfully increased both the amount of
area covered by lipids during deposition and the overall ordering within the domains. While
overall, the LS deposition technique leads to the highest quality monolayers on HOPG,
heating the substrate prior to deposition is a quick and simple alteration that also leads to
quality films. Additionally, the amount of solution deposited was varied as the temperature
was changed. An unheated sample requires less solution to completely cover the surface
while the volatile solvent evaporates faster as the temperature was increased, requiring
more to be deposited initially.

Figure 2.3. AFM phase images of polymerized diyne PE deposited onto a) HOPG
heated to 207 °C and b) 107°C
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2.2 Assessing Film Solvent Stability
If the chemical orthogonal surface patterning intrinsic in lying down phases of
polymerizable amphiphiles is to be used as a basis for deposition and further materials with
nanoscale ordering, the film muse be reasonably robust toward exposure toward solvent.
In addition to the use of AFM and STM to attempt to analyze polymerization yields, a set
of washing conditions were explored. It was hypothesized that unpolymerized monomers,
weakly adsorbed to the HOPG substrate, would desorb during washing leaving strongly
adsorbed polymeric structures behind. AFM images (Figure 2.4) of both polymerized and
unpolymerized lipids were prepared without washing (Figure. 2.4a), washed gently for 5
seconds with Nanopure H2O (18.2 MΩ) (Figure 2.4b) and washed gently for 10 seconds
(Figure 2.4c). Prior to washing, both unpolymerized and polymerized show clear domains.
A 5 second wash disrupts the unpolymerized film and the polymerized sample undergoes
modest etching at domain boundaries. The 10 second wash removes the majority of lipids
from the unpolymerized sample and leaves many domains intact in the polymerized sample.
To assess the effects of longer solvent exposure times 5, and 10-minute soaking
protocols were used. Longer exposure time to Nanopure H2O increased degradation in both
films, but large domains in both polymerized and unpolymerized samples persisted,
suggesting increased robustness toward solvents with increasing domain size, as well as
polymerization. Washing with ethanol and other organic solvents (e.g. 3:2 hex/ipa)
produced significant damage to the film in both sets of samples.
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Figure 2.4. Monolayers of polymerized and unpolymerized phospholipids on HOPG
subjected to a) no washing, b) 5 second and c) 10 second gentle washing with
Nanopure water.

2.3 Assessing Film Ability to Template Small Molecules
To test the abilities of the charged phospholipid head groups to pattern the
interaction between nanoscopic objects and the substrate, two small model species
deposited onto the polymerized lipid template on the HOPG substrate.

2.3.1 Gold Nanorods
Gold nanorods are a widely used model system in biomedicine, due to their unique
physicochemical properties6, and commercial availability. Here, we tested where the rows
of charged phospholipid headgroups could be used to template orientation of gold nanorods
deposited on the surface. Two types of gold nanorods (10nm diameter x 45nm length) were
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used for the experiments described below. One type is suspended in organic solvent while
the other is coated in Cetyltrimethylammonium bromide (CTAB), a cationic surfactant and
suspended in water. The concentrations for deposition were determined by using the area
taken up by a single gold nanorod to identify a desired percent of surface area covered (1030%). Obtaining images that simultaneously reveal nanorod orientation and visible
lamellar features is difficult due to the relatively large nanorod height in comparison with
the sub-nanometer topographic protrusions of the phospholipid headgroups. Gold nanorods
in chloroform were imaged on bare HOPG substrate (Figure 2.4a), polymerized diyne PC
(Fig.2.4b, c) and PCDA (not shown).

Figure 2.5. a) AFM height image (5 µm) of bare HOPG with gold nanorods in
chloroform b) AFM phase image of polymerized diyne PC and gold nanorods in
chloroform c) magnified AFM phase image (500 nm) of the area outlined in the black
box in (2.4b)
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Experimental results did not indicate the orientation and position of either type of
gold nanorod is determined by the lipid or fatty acid template, which may result from the
zwitterionic headgroup character. Ongoing experiments seek to develop a suite of new
polymerizable amphiphiles with tailored headgroup chemistry that will enable assembly of
nanoscopic objects.

2.3.2 DNA Fragments and Stepladder
Deoxyribonucleic acid (DNA) was selected as a second candidate for guided selfassembly on the amphiphilic template. The diameter of the DNA helix (2 nm) is
commensurate with the topographic protrusions due to the lipid template (0.5 nm).
Additionally, DNA has a negatively charged phosphate backbone which was predicted to
interact with the terminal amine in the phospholipid head group. Modeling suggested that
the phosphate groups could potentially be in the “up” and “down” orientation. When the
“down” orientation occurs, the interaction with DNA is favorable due to positively charged
amines facing upwards and conversely, if the “up” orientation occurs, the negatively
charged phosphate in the lipid head group will repel the negatively charged backbone of
the DNA, making the interaction unfavorable.
Three lengths of both single-stranded (ss) and double-stranded (ds) DNA (21bp,
58bp, and 100 bp) were obtained through a collaboration with the Chengde Mao group; the
DNA step ladder was obtained from Sigma-Aldrich (100 bp, 50 bp and 1 kb). Experiments
were performed with monolayers of diyne PC and PCDA. Standard deposition protocol
was to drop cast 50 μl of the DNA solution (0.5 μg/ml to 5.0 μg/ml) and incubate (10
minutes) before wicking it away. DNA did not appear to bind to the diyne PC, or PCDA
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on the HOPG in any observable pattern. A variety of features were observed in the AFM
phase images (Figure 2.5). After deposition of 21 base, ssDNA onto polymerized diyne PC
(Figure 2.5a), bright spots appear in the film. These spots could indicate aggregation of
DNA fragments on the surface, their placement, however, does not appear to be dependent
upon the directionality of the films. After deposition of 100 base pair, double-stranded
DNA onto polymerized diyne PC (Figure 2.5b), round features appear on top of the film,
possibly indicating vesicle or micelle formation of the unpolymerized monomers
remaining on the surface when the DNA solution is deposited. After deposition of a 50
base pair DNA step ladder (Figure 2.5c), linear features were observed with apparent
topographic heights of ~ 0.8 nm, smaller than the height observed in previous AFM images
of DNA.7 It is likely the small change in surface topography observed was a result of the
lipids interacting with water during the incubation period and being lifted off of the surface
into a semi-vertical orientation.
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Figure 2.6. AFM phase images (500 nm) of polymerized diyne PC with a) 21 base,
ssDNA b)100 base pair, dsDNA and c) 50 base pair DNA step ladder

In images where it appears that DNA is binding to the lipid films, the molecules of
DNA do not appear to have a preference to bind to the positively charged terminal amine
in the head group. When imaging using AFM, interaction between the tip and the molecules
on the surface can distort the accuracy of the surface height measurements. This effect may
have been a contributing factor to the unexpected low height of DNA on the later images
of the diyne PC template.

2.4 Conclusions and Future Applications
To create an amphiphilic template of polymerizable phospholipids, a wide range
of deposition and polymerization conditions were explored. AFM, STM and other
characterization methods were utilized to obtain images of two commercially available
phospholipids and two fatty acids, all of which contain a diacetylene group capable of
being photopolymerized. There are many possible avenues to explore using the newly
developed films and their ability to pattern surfaces in scale from microns to nanometers.
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Strategies include soft lithography in which an elastomeric stamp is made from a
polymeric material. Molecular ink is then applied and transferred to the surface,
reproducing the stamp features.8
Currently alkanethiols are the most commonly used molecular inks in soft
lithography but diyne lipids offer a potential new molecular ink that can easily be
chemical varied to create surfaces with chemically diverse functional groups in patterned
vs. unpatterned areas. Diyne lipids are a new and diverse class of molecular ink
candidates for this application. Nanografting and shaving can also create patterns through
use of molecular inks and AFM. The precise control of self-assembling polymerizable
lipids on graphite has offered an alternative to alkanethiols for 2D surface patterning.
Gaining control over film deposition is a priority and is currently being investigated,
before exploration of the many applications that could utilize the newly developed films
can begin.
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ABSTRACT: Precisely tailoring surface chemistry of layered
materials is a growing need for ﬁelds ranging from electronics to
biology. For many applications, the need for noncovalently
adsorbed ligands to simultaneously control interactions with a
nonpolar substrate and a polar solvent is a particular challenge.
However, biology routinely addresses a similar challenge in the
context of the lipid bilayer. While conventional standing phases of
phospholipids (such as those found in a bilayer) would not provide
spatially ordered interactions with the substrate, here we
demonstrate formation of a sitting phase of polymerizable
phospholipids, in which the two alkyl chains extend along the
surface and the two ionizable functionalities (a phosphate and an
amine) sit adjacent to the substrate and project into the solvent,
respectively. Interfacial ordering and polymerization are assessed
by high-resolution scanning probe measurements. Water contact angle titrations demonstrate interfacial pKa shifts for the lipid
phosphate but not for the amine, supporting localization of the phosphate near the nonpolar graphite surface.

■

INTRODUCTION

layered material surface enables ligand ordering that can more
strongly resemble SAMs on extended solids.23,26 However,
maintenance of extended π-conjugation in the layer requires
noncovalent functionalization, restricting the choice of
ligands.26 These challenges have impacted the utility of
graphene and other layered materials in many applications.
Monolayers on highly oriented pyrolytic graphite (HOPG)
and graphene are frequently formed on the basis of lying-down
phases of molecules;23,24,26,27 the increased surface area of the
molecule−substrate interaction partially oﬀsets the decreased
per-atom interaction strength of noncovalent (vs covalent)
interactions.23 Two common classes of adsorption motifs
utilized are long alkanes (e.g., 23-carbon tricosane)28,29 and
planar aromatic hydrocarbons (e.g., pyrene, anthracene).24,30 In
noncovalent monolayers, molecule−molecule interactions also
play a more prominent role in monolayer stability. These may
be based on van der Waals interactions between long alkanes
such as tricosane, one or more hydrogen-bonding interactions
(e.g., between planar aromatic molecules that display carboxylic
acids on their peripheries31 or β-strand peptides that hydrogen
bond to form β-sheets32,33), or ionic interactions (e.g., in
MOFs34).
However, even between very long alkanes, intermolecular
forces are relatively weak (∼5 kJ/mol of CH2 between alkane
chains35 and 5−10 kJ/mol of CH2 for alkane−HOPG

Precisely controlling surface chemistry using self-assembled
monolayers (SAMs) and bilayers has been a central focus of
research in both synthetic and biological interfaces.1−4 Much
synthetic monolayer chemistry has its basis in the formation of
SAMs of alkanethiols on gold and the coinage metals,
pioneered by groups including those of Whitesides, Nuzzo,
and Allara in the 1980s.5−8 Standing-up phases of alkanethiol
monolayers form based on a combination of covalent or ionic
molecule−substrate interactions (e.g., Au−S), strong molecule−molecule van der Waals interactions (e.g., between long
alkyl chains) that improve ordering, and a terminal functionality
(e.g., −CH3, −COOH, −NH2, biotin, DNA) that confers
solvent wetting properties and/or selectivity for analytes.8,9 The
surge of interest in colloidal nanocrystals10−15 has further
increased the importance of monolayer chemistry as well as
opened entirely new avenues for control of morphology,
electronic properties, solubility, and analyte binding.16−20
Layered materials (e.g., HOPG, graphene, MoS2)21,22
represent a new frontier in utilizing monolayer chemistry to
control physical properties and solubility23,24 but also introduce
substantial challenges.23,25 In single-layer graphene, for
instance, all atoms are surface atoms and in solution can
actually be coordinated through two faces, promising unusually
high levels of electronic control through the design and spatial
organization of appropriate ligands.23,24 In contrast with
colloidal nanoscopic materials, in which surface curvature
typically decreases ligand ordering, the relative ﬂatness of a
© XXXX American Chemical Society
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interactions36). Thus, an extension of this strategy involves
noncovalent functionalization using lying-down phases of
reactive molecules, followed by polymerization within the
layer.37−39 One such route is based on self-assembly of longchain carboxylic acids derivatized with an internal diyne that
can be photopolymerized to yield a conjugated ene−yne
polymer.37,40−42 A number of studies have examined this
reaction on HOPG,37,43,44 graphene,45 and MoS2,42,46 due to
interest in the conductive ene−yne as a molecular wire. Such a
strategy can produce monolayers that exhibit some solvent
stability,39,47 but a new challenge arises. Early work on
monolayers on bulk metals has demonstrated that functional
groups positioned adjacent to a hydrophobic monolayer
interface undergo large pKa shifts (frequently 4 units or
more) due to the inability of the interface to stabilize the
charged form of the molecule.48,49 These shifts mean that
groups such as carboxylic acids and amines may be
predominantly neutral near pH 7 (for instance, in biological
buﬀers), substantially altering their chemical behavior.
Interestingly, a vast amount of biology involving weak acids
and bases occurs in a very similar chemical environment: at the
periphery of the cellular membrane. Cellular membranes are
largely composed of phosphoglycerolipids (typically 60−
80%),50 in which two long hydrophobic acyl chains connect
through a three-carbon glycerol backbone to a hydrophilic
head. The head is comprised of a phosphate group connected
through a short linker to a terminal functional group that is
exposed at the solvent interface. The nominal phosphate pKa
values of 1.0 for phosphocholine and 1.7 for phosphoethanolamine51 mean that the group will remain charged at
physiological pH (7.4), even if it undergoes an interfacial pKa
shift. Additionally, the structure of the glycerol backbone
facilitates control over headgroup orientation relative to the
hydrophobic chains that root it in the bilayer.
Here, we take advantage of the phospholipid architecture to
develop an atom-eﬃcient interfacial functionalization strategy
that confers the beneﬁts of both standing-up and lying-down
monolayers. Lipids in this “sitting-phase” geometry coordinate
the surface through two nonpolar alkyl legs, allowing the
terminal functional group in the head to project from the
interface (Scheme 1). Leveraging noncovalent assembly and
subsequent polymerization utilizing polymerizable phospholipids makes fundamental and important diﬀerences in the
surface chemistry that enable a new level of control over the
ligand’s substrate and solvent interactions. A critical element of
this strategy is the elevation of the terminal functional groups
above the substrate and the monolayer to reduce interfacial pKa
shifts. Even modest separation also increases steric accessibility,
which has previously been found to facilitate binding of analytes
from solution.52,53

Scheme 1. Topochemical Polymerization of Diyne Lipids

diﬀerent from the high molecular weight linear polymers that
would be necessary to stabilize the sitting-phase monolayers
targeted here.
Monolayers of diyne amphiphiles were prepared either by
drop-casting a small amount of dilute amphiphile in organic
solvent or through Langmuir−Schaefer deposition (see the
Experimental Methods for details). Because monolayers of fatty
acids such as pentacosadiynoic acid (PCDA) have been
prepared previously, we compared self-assembled structures
of PCDA (Figure 1a) and two polymerizable phospholipids:
1,2-bis(10,12-tricosadiynoyl)-sn-glycero-3-phosphocholine
(diyne PC, Figure 1b) and 1,2-bis(10,12-tricosadiynoyl)-snglycero-3-phosphoethanolamine (diyne PE, Figure 1c). The
two phospholipids diﬀer only in the structure of the terminal
headgroup functionality; diyne PE terminates in a primary
amine, which may be charged or neutral depending on pH and
solvent, while the diyne PC terminates in a quaternary
ammonium group, which remains charged under all pH and
solvent conditions.
A combination of atomic force microscopy (AFM), semiempirical molecular modeling, and molecular dynamics
simulation was used to examine molecular adsorption
geometry. First, we assessed structural features in AFM images
to address the question of whether molecules assemble head-tohead, creating double rows of headgroups with a ∼6 nm
periodicity (Scheme 1), or head-to-tail, resulting in single rows
of headgroups with ∼3 nm periodicity. Second, because the
molecules can adsorb through two chemically diﬀerent faces,

■

RESULTS AND DISCUSSION
Self-Assembled Sitting Phases of Diyne Phospholipids. As a starting point for developing a sitting-phase ligand
chemistry for layered materials, we ﬁrst test the ability of
polymerizable diyne phospholipids54,55 to self-assemble into
appropriate structural elements. Previous studies of diyne
phospholipids in standing-phase monolayers and bilayers
indicate that the headgroup tilts; as a result, the two functional
alkyl chains penetrate diﬀerent distances into the bilayer.56
Thus, when the monolayer is polymerized, the two functional
groups join two diﬀerent polymer chains in the membrane,
resulting in low molecular weight cross-linked polymers very
B
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Figure 1. Modeled structures and AFM images of self-assembled polymerizable amphiphiles on HOPG. The ﬁrst column shows (a) PCDA, (b)
diyne PC, and (c) diyne PE. For each molecule, the second column shows two views of the solvent-minimized molecular structure (top) and a view
of the solvent structure adsorbed to HOPG (bottom). The adsorbed structures were minimized to create the models in the third column, showing
top and side views of each monolayer. In the fourth column, AFM phase images show large domains of molecules oriented epitaxially on HOPG;
high-resolution images in the ﬁfth column reveal lamellar periodicities (∼6 nm) commensurate with the head-to-head models shown in the second
column.

eight diyne lipids each adsorbed to a stack of two graphene
sheets (see the Supporting Information), with all molecules
adsorbed in either a phosphate-down conﬁguration (Figure 2a)
or a phosphate-up conﬁguration (Figure 2b). Additionally,
because the phosphocholine and phosphoethanolamine headgroups are narrower than the combined width of the two alkyl
tails, it is possible to envision that headgroups from adjacent
rows might interdigitate, leading to a conﬁguration in which
phosphates from one row lie next to the terminal amine or
ammonium groups of molecules in the adjacent row. Such an
interdigitated structure would be expected to increase the
robustness of the monolayer, while likely decreasing the solvent
accessibility of the headgroups. Therefore, we created sets of
models in which molecules are initially positioned with
interdigitated headgroups and models in which the rows are
positioned 4 Å further apart, producing a noninterdigitated
initial headgroup conﬁguration. Minimization results in chloroform are presented in Figure 2c, as an energy diﬀerence
between phosphate-down and phosphate-up adsorption geometries, expressed in units of eV/molecule (1 eV/molecule ≈
96 kJ/mol). Both interdigitated and noninterdigitated initial
headgroup conﬁgurations lead to an energetic preference of
0.6−0.7 eV/molecule for the phosphate-down conﬁguration.
Analyzing contributions from van der Waals and electrostatic
interactions, strain, and solvation reveals that the preference

we performed energy minimizations to examine which
adsorption geometry is preferred, an issue that would impact
which functional groups in the head are most solvent-accessible.
AFM images of all three molecules deposited on HOPG
reveal similar striped patterns with domains arranged at ∼120°
angles, characteristic of epitaxy with the hexagonal HOPG
lattice, as expected from previous experiments with diynoic
acids.44 Line scans extracted from high-resolution AFM images
exhibit lamellar periodicities of 6.3 ± 0.1 nm for diyne PE and
6.6 ± 0.1 nm for diyne PC. This is in good agreement with the
modeled widths of double lamellae (6.0 nm for diyne PE and
6.4 nm for diyne PC) plus a van der Waals contact distance.
Importantly, this suggests that the head-to-head structure is
energetically preferred for both phospholipids, since a head-totail arrangement would likely produce features with ∼3 nm
periodicity.
Unlike the diynoic acids, both diyne phospholipids contain a
chiral center in the headgroup, creating multiple possible
adsorption geometries. Phospholipids may adsorb with the
phosphate (−PO2−)− facing the substrate, increasing the
solvent accessibility of the amine (and presumably partly
screening the phosphate charge), or they may adsorb with the
phosphate proximal to the solvent and the amine adjacent to
the surface. To test which conﬁguration is more energetically
favorable, we created models consisting of two adjacent rows of
C
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Figure 2. Minimizations of amphiphiles in phosphate-down and phosphate-up adsorption geometries. Minimized models of rows of molecules
adsorbed in (a) phosphate-down and (b) phosphate-up conﬁgurations reveal greater tail group ordering for the phosphate-down conﬁguration in
both interdigitated and noninterdigitated headgroup conﬁgurations. (c) Energy diﬀerences between the two adsorption conﬁgurations indicate that
the phosphate-down conformation is preferred due to increased van der Waals interactions.

arises from increased van der Waals interactions in the
phosphate-down conﬁguration. This is qualitatively visible in
side views of the minimized models (Figure 2a,b) as increased
ordering of the tail groups for phosphate-down structures in
comparison with those of phosphate-up structures.
On the basis of modeling, it is not evident whether
interdigitated headgroups would be preferred; however, a
comparison of calculated and experimental lamellar widths
suggests that the peripheries of the lamellar structures are not
interdigitated. Minimizations of interdigitated structures lead to
slightly smaller calculated average lamellar widths (5.8 nm for
diyne PE and 5.7 nm for diyne PC) than those calculated for
noninterdigitated structures (6.0 and 6.4 nm, vide supra). For
diyne PC in particular (presumably due to the larger steric bulk
of the terminal quaternary ammonium group), this leads to a
relatively large diﬀerence between the modeled structure width
and the structural periodicity observed experimentally in AFM
images. Therefore, we postulate that the surface-adsorbed lipids
adopt a noninterdigitated headgroup organization, which would
increase the steric freedom of the terminal functional groups in
comparison with an interdigitated structure.
Polymerization of Diyne Phospholipids. While individual molecules are relatively weakly adsorbed at the interface,
surface-templated polymerization provides a route for increasing monolayer stability. Because diynoic acid monolayers on
HOPG are known to undergo surface-templated photopolymerization,40,44 it is reasonable to expect the same
reactivity from the diynoic lipids we use here. However, a key
structural consideration prompted us to examine molecular
models to further explore the likelihood of polymerization:
adjacent chains in lipid lamellae are bound together through the
phospholipid headgroup, while the chains in diynoic acid
lamellae are not.

Such a consideration is important in the context of this
surface-templated reaction for two reasons. First, photopolymerization rates for diynes are known to depend strongly
on the distance between the two bond-forming carbons in the
crystal. In 3D crystals of smaller diynes (particularly ptoluenesulfonate hexadiyne),57,58 increases of 1.0 Å between
the bond-forming carbons correspond to a 2-fold decrease in
polymerization rate. Similar constraints hold in 2D domains of
diacetylene; in addition to decreasing polymerization eﬃciency
with increasing separation between bond-forming carbons,
studies of diynoic acids on HOPG and MoS2 suggest
diﬀerences in organization and polymerization behavior based
on diﬀerences in lattice constants and work functions of the
substrates.42,46 For instance, on MoS2, polymerization eﬃciency
is ∼4 times higher than on HOPG, due to the increased
conformational freedom aﬀorded to alkyl chains in weaker
epitaxy with the MoS 2 lattice. 46 A second structural
consideration for polymerization is that the diyne functional
group undergoes a rotation of ∼45° in the plane of the
substrate in order to join the growing ene−yne polymer
chain.57 Therefore, it is possible that the additional constraints
placed on chains joined through a headgroup would prevent
them from undergoing polymerization.
With these considerations in mind, we compare the average
distance (D10−13) between bond-forming carbons (C10 of one
chain and C13 of the adjacent chain) in monolayers of PCDA
with those for the diyne phospholipid monolayers we form
here. In calculating the C10−C13 distances for lipids, we
examine pairs of chains both within a single molecule and
between adjacent molecules. Minimized models of the diyne
lipids show D10−13(diyne PC) = 4.1 Å, comparable to
D10−13(PCDA) = 4.0 Å. In addition, the initial angle Θ
between the diyne and the lamellar axis is slightly smaller for
the phospholipids (ΘPCDA = 59°, Θdiyne PC = 51°), leading to
D
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Figure 3. Energy-minimized molecular models and STM images showing polymerized (a−d) PCDA and (e−h) diyne PC. Minimized models of (b)
unpolymerized PCDA and (f) diyne PC show that the distance between bond-forming carbons (D10−13) and the angle between diyne and lamellar
axis (Θ) are similar for the two molecules. STM images of polymerized (d) PCDA and (h) diyne PC show apparent protrusions corresponding to
the conjugated ene−yne polymer. Highlighting in panel e indicates the alternating alkyl chain orientation probed in Figure 5.

favorable reduced rotational angles relative to PCDA (ΔΘPCDA
= 45°, ΔΘdiyne PC = 34°).
STM images of polymerized diynes are known to exhibit
features with increased apparent height due to formation of the
conjugated ene−yne polymer backbone.4,40 Figure 3 shows
STM images of polymerized diynoic acids (Figure 3d) and
polymerized diyne PC (Figure 3h). Apparent protrusions in the
image appear corresponding to modulations in both the
topography and the local density of electronic states (LDOS).
The relatively small HOMO−LUMO gap in polymerized
diacetylenes vs diacetylene monomers increases the LDOS near
the Fermi level, increasing the probability of electron
tunneling;41 although the native band gap of bulk polydiacetylenes is 2.3−2.5 eV, p-doping from HOPG substrates
can reduce the band gap to as little as 0.5 eV.42 Imaging at
suﬃciently large negative sample biases (here, Vs = −1.5 V)
facilitates a two-step tunneling process that proceeds through
the polydiacetylene wire.41,59 While a number of studies
provide experimental evidence suggesting that PCDA and
other diynoic acids form a polymerized structure in which the
ene−yne polymer is elevated ∼1.4 Å in relation to the
surrounding alkyl chains,40,44 DFT studies suggest that the
lifted and in-plane polymer structures are similar in energy,60
and in our simulations, models of both polymerized PCDA and
diyne PC minimize to in-plane structures, though experimentally we ﬁnd the standard linear features (Figure 3d) observed
previously in STM images of polymerized PCDA. Previous
studies imaging monolayers of long-chain diynes that do not
form hydrogen-bonded dimers between headgroups (e.g.17,19hexatriacontadiyne) ﬁnd a transition from a lifted phase at 220
K to the in-plane conformation at room temperature,61 which
lacks the protruding linear features visible in STM images of
PCDA. Here, while we observe the appearance of some linear
features in STM images of polymerized diyne phospholipids
(Figure 3h), the surface density of such features is lower than
for PCDA, which could indicate either lower polymerization

eﬃciency or the formation of an in-plane polymerized phase, as
indicated in the minimized model (Figure 3e).
Because our primary interest is in the wetting properties of
the interface, we use a washing assay to assess the impact of the
polymerization on improving ﬁlm robustness toward solvent.
Samples of unpolymerized and polymerized amphiphiles were
imaged and then subjected to sequential washing and imaging
cycles to understand the extent to which washing removed
molecules from the monolayer. Ethanol was used as a low
surface tension washing solvent. Samples were washed
vigorously with a stream of solvent from a squeeze bottle for
5-s intervals and then blown dry using compressed nitrogen
gas. Figure 4 shows prewash and postwash images for
unpolymerized and polymerized PCDA and diyne PE.
Polymerized PCDA (Figure 4b) exhibits enhanced stability
relative to unpolymerized PCDA (Figure 4a), demonstrating
well-resolved lamellar structures within the domains throughout the washing procedure, although molecules at domain
edges were eroded. The destabilizing eﬀect of washing is also
reﬂected in the increasing streakiness of the domain images,
typically indicative of the presence of loose molecules.
Conversely, a substantial fraction of the surface of the
unpolymerized PCDA sample appeared bare after 5 s of
washing, with only sparsely distributed aggregates of PCDA still
visible, appearing as dark islands in the phase insets. In contrast,
washing unpolymerized diyne PE (Figure 4c) resulted in slow
etching of domain edges, with ∼40% of the surface containing
ordered domains even after 30 s of washing. For polymerized
diyne PE (Figure 4d), etching around domain edges was much
slower, and ∼80% of the surface remained covered after 30 s of
washing. We postulate that the enhanced stability of both
polymerized and unpolymerized phospholipids relative to the
diynoic acids may result from the increased number of alkyl
carbons per molecule.
Molecular models suggest substantial diﬀerences in alkyl
chain orientation between PCDA and the diyne phospholipids
E
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Figure 5. PM-IRRAS spectra of ﬁlms of PCDA and diyne PC exhibit
diﬀerences in (a) C−H and (b) CO stretch intensities consistent
with alkyl chain orientation diﬀerences observed in energy-minimized
molecular models.

is expected to impact their ionization and, thus, interactions
with solvents and analytes.
A number of techniques, including diﬀerential capacitance
measurements,63 nonlinear optical spectroscopy,64 and contact
angle goniometry,48 can be used to assess ionization behavior at
interfaces. Here, we use contact angle titration, in which a series
of small droplets of buﬀers with controlled pH are applied to
the interface; the contact angles of the buﬀer droplets change in
pH ranges corresponding to the ionization of functional groups
at the interface.48 Interfacial pK1/2 values are known to diﬀer
substantially from pKas of the same functionalities in solution.
For instance, the pKa of acetic acid in dilute aqueous solution is
∼4.7.65 However, previously it has been shown that both
carboxylic acid-terminated SAMs and oxidized polymer ﬁlms
displaying carboxylic acids typically exhibit pK1/2 values of 7−
8.48 Similarly, pK1/2 values of amines in alkanethiol SAMs
typically decrease relative to pKa values in aqueous solutions.
While the pKa of dilute methylamine in aqueous solution is
10.5,49 one study measured a pK1/2 of 6.5 for an NH2terminated undecanethiol SAM, lower than the measured pK1/2
of 7.4 for a COOH-terminated undecanethiol SAM measured
in the same work.49 Both shifts can be understood by
considering the equilibrium between charged and neutral
forms of the molecules; in both amines and carboxylic acids,
proximity to the nonpolar interface decreases stabilization of
the charged form of the functional group, shifting the
equilibrium toward the neutral form. Similarly, pK1/2 has
been shown to vary with the surface density of functional
groups in a SAM.48 For a 75% COOH-terminated alkyl SAM,
the measured pK1/2 was 8.5, while for a lower-coverage 15%
COOH-terminated alkyl SAM, the pK1/2 shifted as high as 11.
Both surface shifts and those due to fractional coverage are
important in predicting the ionization behavior of functional
groups in the monolayers prepared here. Figure 1a shows that
for PCDA monolayers, approximately 10% of the surface
consists of ionizable functional groups. However, the chemical
environment of the carboxylic acid groups is more similar to
that which would be found in a high-percentage COOHterminated alkyl thiol SAM, since the functionalities are
clustered at the lamellar edges.
Figure 6 shows the results of contact angle titrations for
pentacosane, PCDA, diyne PC, and diyne PE. For ﬁlms of
pentacosane (Figure 6a), a 25-carbon alkane, on HOPG,
contact angles are ∼98° across the tested pH range (1−13).
For PCDA (Figure 6b, squares = advancing, circles = receding),
contact angles are lower than for pentacosane due to the
introduction of the polar carboxylic acid functional group.

Figure 4. Solvent washing assay for unpolymerized and polymerized
PCDA (a and b) and diyne PE (c and d) shows the enhanced stability
of polymerized monolayers in comparison with unpolymerized
monolayers and increased stability of diyne PE vs PCDA. Insets of
panels a and b show phase images of the entire images or the
corresponding scanned areas marked by the black square.

(Figure 3a,e). In PCDA, strong hydrogen-bonding interactions
in carboxylic acid dimers order the headgroups, and tails form a
tightly packed lattice with the zigzag backbone of the alkyl
chains parallel to the HOPG surface.40 In contrast, our models
suggest that the lipid headgroups are somewhat disordered due
to the three-dimensional geometry around the glycerol
backbone. Our models also suggest that the lipid tail groups
form an unusual structure in which the alkyl chains alternately
zigzag parallel and perpendicular to the HOPG surface
(highlighted in Figure 3e). Polarization modulated IR reﬂection
absorption spectroscopy (PM-IRRAS)62 measurements of ﬁlms
of PCDA and diyne lipids on HOPG exhibit substantial
diﬀerences in C−H stretch intensity (Figure 5a) consistent
with this diﬀerence in ordering. Ester CO stretch peak
intensities for diyne PC are also reduced relative to PCDA C
O stretch intensities (Figure 5b), consistent with energyminimized models, suggesting that the ester linkage adopts a
variety of conﬁgurations relative to the surface normal, in order
to bring the two diynes into alignment as the lipid conforms to
the graphite surface.
Controlling the Charge State of Surface Functional
Group Patterns. The diﬀerence in placement of the
phosphate and amine functional groups relative to the interface
F
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Figure 6. Contact angle titrations showing changes in contact angle with buﬀer pH for HOPG with adsorbed (a) pentacosane, (b) polymerized
PCDA, and (c) polymerized diyne lipids PC and PE. Square markers indicate advancing contact angles; circles indicate receding contact angles. Error
bars indicate the standard deviation in angle over a series of nine measurements acquired from three diﬀerent samples.

a sigmoidal ﬁt (blue line). Therefore, while the pK1/2 is shifted
due to the nonpolar environment at the interface, clustering the
carboxylic acid groups at lamellar edges decreases the pK1/2
relative to the value of 11 measured previously for 15% COOHterminated standing phases of alkanethiol SAMs on Au(111).48
In contrast with PCDA, diyne PC (Figure 6c, red squares =
advancing; red circles = receding) has a terminal quaternary
ammonium group that remains charged across the pH range,
leading to advancing contact angles ∼74°, similar to those for
the ionized form of PCDA. Although the ammonium group
remains charged, at low pH, the phosphate group can become
protonated. While the solution pKa for a phosphocholine
phosphate is 1, here we observe a pK1/2 of approximately 5.9,
consistent with the interfacial pKa shift of the carboxylic acid in
PCDA. Similarly, for diyne PE, an increase in receding contact
angle is observed at low pH (Figure 6c, yellow circles), with a
calculated pK1/2 = 4.9. This sigmoidal ﬁt was calculated using
additional data points below pH 3 to improve accuracy (see the
Supporting Information).
The diyne PE primary amine has a solution pKa of 11. A
small increase in the advancing contact angle is observed near
pH 11 (Figure 6c, yellow squares), consistent with neutralization of the amine. No corresponding increase in receding angle
is observed (Figure 6c, yellow circles), presumably because the
phosphate group remains charged and can inﬂuence the
receding angle more strongly than the advancing angle.
Importantly, this suggests that the diyne PE amine does not
undergo a signiﬁcant interfacial pK1/2 shift due to its separation
from the hydrophobic interface and the proximity of the
charged phosphate group.

Below pH 5, the carboxylic acids are neutral, leading to
advancing contact angles of ∼84°. We correlate this decrease
with the fractional surface coverage of carboxylic acids using a
modiﬁed form of the Young−Dupré equation for interfaces
with nanoscale chemical heterogeneity:66
(1 + cos θPCDA)2 = falkyl (1 + cos θalkyl)2 + fCOOH
(1 + cos θCOOH)2

Using the measured contact angle of 98° for alkyl chains
aligned epitaxially on HOPG, 84° for neutral PCDA, and 30°
for neutral COOH groups (value observed in previous contact
angle measurements on 100% COOH-terminated alkyl thiol
SAMs48), the observed decrease in contact angle relative to
pentacosane would be expected for an 18% surface coverage of
neutral carboxylic acid groups, consistent with moderate
disordering of the COOH groups during wetting. We note
that it is not entirely clear that the contact angle for a lyingdown phase of COOH dimers would be exactly the same as
that (30°) for a standing phase of alkanethiol-terminated
COOH groups and that, if the bond dipoles in the carboxylic
acid are oriented in the plane of the monolayer, this would lead
to a somewhat higher water contact angle. Using a larger
contact angle in the above equation results in a higher
calculated f COOH, implying more disordering at the interface
and a disruption of the COOH dimers along the periphery of
the lamellar structure. This reorientation would produce
hydrophilic areas with unpaired −COOH groups more closely
resembling standing-phase COOH-terminated alkanethiols.
Thus, the calculated hydrophilic surface coverage of 18%
should be considered an approximate but reasonable minimum.
With increasing pH, the carboxylic acids begin to ionize,
further decreasing both advancing and receding angles. On the
basis of the receding angles (blue circles), in which the larger
change in contact angle makes the transition more evident, we
estimate an onset of ionization at pH 5 and a pK1/2 of 9.5, using

■

CONCLUSIONS AND PROSPECTS

Here, we have demonstrated a route for functionalization of
layered materials based on sitting phases of polymerizable
lipids. The lipids contain multiple functional groups (phosphate
and amine or ammonium) that are precisely positioned relative
G
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control electronics (RHK Technology, Troy, MI). STM tips were
prepared mechanically from Pt/Ir alloy wire (Goodfellow, Pt 90%, Ir
10%). Imaging was performed in constant current mode with a tip bias
of 1.5 V and tunneling current set point of 7 pA.
Energy Minimization. Software packages Maestro46 and Macromodel47 (Schrödinger, Cambridge, MA) were used, respectively, to
visualize the structures of phospholipids and fatty acids on graphene
and to perform the force ﬁeld minimizations and molecular dynamics
simulations. All models were minimized using the OPLS_2005 force
ﬁeld,48 with normal cutoﬀs for van der Waals, electrostatic, and
hydrogen-bonding interactions. Minimizations were performed using
the Polak−Ribiere conjugate gradient (PRCG) algorithm and gradient
method with 50 000 runs and a convergence threshold of 0.05. Most
minimizations converged in less than 10 000 runs. For all calculations,
atoms in the graphene sheets were frozen, to more closely mimic the
structure of HOPG. Thus, while they contributed to the forces present
in the system, their positions did not change in response to
conformational changes of the adsorbed amphiphiles. For simulations
using aqueous buﬀers, molecular dynamics simulations were carried
out using explicit water and ions to simulate 5 mM MnCl2 (see the
Supporting Information). Brieﬂy, 1680 water molecules, 19 Mn2+ ions,
and 38 Cl− were positioned with appropriate spacings over graphene
sheets identical to those used in chloroform and solvent-free
minimizations. Molecular dynamics simulations were run for 200 ps;
models were subsequently reminimized and energy values tabulated as
for other models.
Contact Angle Titrations. Contact angle titrations were
performed using an Attension Theta optical tensiometer (Biolin
Scientiﬁc, Stockholm, Sweden) in sessile drop mode. Buﬀers with 20
mM buﬀering capacity at a range of pH values from 1 to 14 were
purchased from Sigma-Aldrich and used as received. The pH of each
buﬀer was measured prior to utilization in contact angle measurements
to ensure that the measured pH was within 0.2 units of the stated pH.
For each measurement, a 5-μL droplet of buﬀer solution at the stated
pH was deposited on a prepared sample of polymerized amphiphile on
HOPG, and the contact angle was measured within 10 s and recorded
as the advancing contact angle. Subsequently, solvent was withdrawn
from the droplet using a syringe with a 32-gauge needle, until the
solvent front on the sample receded. The contact angle was measured
at this point and recorded as the receding contact angle. Each contact
angle graphed in the paper represents the average of nine points (three
points measured on each of three diﬀerent samples). Typically, it was
possible to acquire a grid of nine measurements per 1 × 1 cm sample.
PM-IRRAS. Spectra were acquired using a custom-built PM-IRRAS
spectrophotometer. The infrared light source, interferometer, and data
collection and processing were provided by a Nicolet iS50R
spectrometer (Thermo, Waltham, MA). All optical components
were purchased from Thorlabs (Newton, NJ) unless otherwise
speciﬁed. The infrared beam was passed from the spectrometer exit
port into a polycarbonate enclosure and directed through a KRS-5 lens
at a 70° incidence angle using AR coated gold mirrors. The beam then
passed through a holographic BaF2 linear polarizer set at an angle of
45° relative to the optical axis of a Hinds Series II ZNS50 photoelastic
modulator (Hinds Instruments, Portland, OR), which modulated the
beam at a 50 kHz frequency with the half-wave retardation set to 2100
cm−1. The beam was then focused onto the sample and reﬂected
through a second BaF2 linear polarizer, which was adjusted to
minimize the polarization eﬀects of the substrate. Finally, the light was
focused through a BaF2 lens onto a HgCdTe high D* detector
(Thermo, Waltham, MA). Spectra were acquired at 8 cm−1 resolution
and normalized by dividing a spectrum of the substrate with a
monolayer by a spectrum of a bare substrate.

to the layered material interface. Because the phosphate sits
close to the interface, it experiences a pKa shift characteristic of
functional groups at hydrophobic interfaces; conversely, the
terminal primary amine in diyne PE, which projects just a few
angstroms above the interface, maintains its standard solution
ionization behavior. This diﬀerence points to the ability to
tailor chemical characteristics of the interface by varying the
functionalities present in the lipid headgroup and their
positions relative to the interface.
On the basis of the diversity of natural lipids (over 100
unique lipids have been identiﬁed to date),50 it is reasonable to
suppose that a large amount of structural and chemical diversity
can be introduced into monolayers using this strategy. In
biology, lipids are known to play roles in stabilizing membrane
curvature and junctions, protein interactions, regulating cell
growth, and biosynthetic pathways, suggesting the possibility
that similarly diverse functions could be stably integrated with
layered materials.

■

EXPERIMENTAL METHODS

Amphiphile Monolayer Preparation. Diacetylene-functionalized
phospholipids and fatty acids were purchased from suppliers indicated
and used as received: 1,2-bis(10,12-tricosadiynoyl)-sn-glycero-3phosphocholine (Avanti Lipids, Alabaster, AL, >99.0% purity), 1,2bis(10,12-tricosadiynoyl)-sn-glycero-3-phosphoethanolamine (Avanti,
>99.0% purity), 10,12-pentacosadiynoic acid (Sigma-Aldrich, St.
Louis, MO, ≥97.0% purity), and 10,12-nonacosadiynoic acid (Tokyo
Chemical International, Tokyo, Japan, >97.0% purity). Chloroform,
hexane, and isopropyl alcohol (ChromAR grade) were purchased from
Macron Fine Chemicals (Center Valley, PA) and used as received.
Self-assembled monolayers of diacetylene-functionalized lipids and
fatty acids were prepared either by drop-casting or Langmuir−Schaefer
(LS) deposition as described below. In both techniques, polymerizable
amphiphiles were deposited on 1 × 1 cm highly oriented pyrolytic
graphite (HOPG, SPI Supplies, West Chester, PA) substrates, which
were freshly cleaved immediately prior to sample deposition. All initial
steps in the deposition process were carried out under UV-ﬁltered light
to prevent polymerization in solution.
For samples prepared by drop-casting, monolayers of lipids and
fatty acids were formed by placing 6 μL of a 0.015−0.017 mg/mL
solution of the functional molecule in a 3:2 (v/v) mixture of
hexane:isopropyl alcohol on a heated (90−107 °C) HOPG substrate.
LS deposition was performed using a KSV-NIMA Langmuir−Blodgett
trough (Biolin Scientiﬁc, Stockholm, Sweden). For the deposition of
fatty acids, 12 μL of a 0.75 mg/mL solution of fatty acid in chloroform
was deposited on a subphase of deionized water (∼18 MΩ). For
phospholipid monolayers, deposition was performed by spreading 15−
20 μL of a 0.5 mg/mL solution of lipid in chloroform onto a subphase
of aqueous 5 mM MnCl2. After the small amount of chloroform used
for amphiphile transfer was allowed to evaporate, trough barriers were
slowly moved inward to adjust the surface pressure. When the surface
pressure reached 10 mN/m, the HOPG substrate was slowly lowered
onto the subphase with the cleaved surface facing down, parallel to the
liquid interface. After 4 min in contact with the liquid interface, the
HOPG was gently lifted out of contact with the liquid using the
automatic dipper.
Diacetylene-functionalized amphiphile monolayers prepared using
the described procedure were photopolymerized by 1 h of irradiation
under a 254-nm 8-W UV lamp with approximately 4 cm between the
lamp and the sample surface.
AFM Imaging. All AFM measurements were performed under
ambient conditions using a Veeco MultiMode (Bruker Instruments,
Billerica, MA) instrument in tapping mode with Nanoprobe
(Neuchatel, Switzerland) PPP-FM or RFESP-75 tips (nominal force
constant 3 N/m and radius of curvature <10 nm).
STM Imaging. STM images were acquired using a custom-built
ambient STM67−69 with a Besocke-type head design and RHK-R9
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Multimodal scanning probe imaging: nanoscale
chemical analysis from biology to renewable
energy
J. J. Bang,a S. R. Russell,a K. K. Ruppa and S. A. Claridge*ab
Scanning probe microscopy methods have enabled characterization of surface topography and electronic
structure down to the nanometer (and in some cases atomic) scale. As such techniques have become more
widely used, a growing community of researchers has sought to broaden the imaging capabilities of
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scanning probe microscopy to provide not just topographical, but also detailed chemical information
about interfaces at these length scales. Here, we provide a tutorial review describing developments in
the ﬁeld of multimodal scanning probe microscopy, highlighting both foundational work and recent
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advances that have facilitated applications ranging from studies of biological structure and function to
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streamlined development of materials for renewable energy.

1. Introduction
Analysis of surfaces and interfaces was revolutionized in the
1980s by the development of scanning probe microscopy
methods that enabled characterization of surface topography
and electronic structure down to the nanometer (and in some
cases atomic) scale.1–4 The rst laboratory demonstration of the

a
Department of Chemistry, Purdue University, West Lafayette, IN, USA. E-mail:
claridge@purdue.edu; Tel: +1-765-494-6070
b

scanning tunneling microscope (STM) was reported in 1982 by
Binnig and Rohrer.5,6 The following year, the same group used
the microscope to resolve the spontaneous restructuring of a
silicon crystal surface to form a structure known as the Si(111)-7
 7 reconstruction.7 Previously, it had not been possible to
experimentally distinguish between the multiple possible
surface structures; this was an important problem since surface
structure impacts reactivity in solid-state materials.8 With this
new analytical technique, the surface structure of Si and other
conducting and semiconducting materials9,10 could be observed
directly in real-space. Soon aerward, in 1986, the rst atomic
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force microscope (AFM) was reported by Binnig and Quate,11
opening the additional possibility of imaging on non-conductive surfaces.
In the intervening years, both techniques have matured,1,12
facilitating surface analysis for a broad range of applications,13,14 including single-molecule measurements.15 Scanning
tunneling microscopy has been applied not only to characterize
ordering in self-assembled monolayers of organic molecules,
but also to control the interface and to observe dynamics. For
instance, the STM tip has been used to initiate surface-templated polymerization reactions with molecules including
diacetylenes,16 creating conductive molecular wires, and to
observe directly the isomerization of functionalized azobenzenes on surfaces.17–20 The complexity of molecules that can
be analyzed using the STM has also increased, with a growing
number of applications to biomolecular structures such as
amyloid peptides associated with Parkinson's and other
neurodegenerative diseases.21–23
Simultaneously, advances in AFM instrumentation have
both dramatically improved resolution and imaging speed, and
further expanded the types of samples that can be analyzed.
Development of liquid and low-force imaging techniques have
made it possible to image delicate samples including
membrane proteins embedded in a lipid bilayer.24–26 Highspeed (in some cases video-rate or faster) imaging has opened
the possibility of imaging dynamic processes on surfaces,
including the rotation of the F1-ATPase.27–30 Atomic-resolution
imaging has even proven possible for selected samples
including large aromatic molecules such as pentacene on a
NaCl bilayer on Cu(111).31,32
As scanning probe methods have become more robust and
widely applied, a growing community of researchers has sought
to broaden the imaging capabilities of scanning probe microscopy to provide not just topographical, but also detailed chemical information about interfaces at these length scales (Fig. 1).

This can be achieved either by modulating a parameter of the
scanning probe experiment itself (for instance the voltage in an
STM experiment, or the frequency of the AFM cantilever vibration), or by introducing an external stimulus such as IR radiation or a magnetic eld. Multimodal information can also be
acquired by co-localizing a second imaging modality, such as
mass spectrometry imaging, with the scanning probe.
Here, we provide a tutorial review describing developments
in the eld of multimodal scanning probe microscopy, highlighting both foundational work and recent advances that have
facilitated applications ranging from studies of biological
structure and function to streamlined development of material
electronic and mechanical properties for renewable energy. We
present examples of both widely used techniques that are
commonly available in shared user facilities in large academic
research institutions, as well as cutting-edge techniques that are
less commonly available but provide new types of nanoscale
structural information. Since atomic force microscopy is the
more broadly used technique in the analytical chemistry
community, we begin by discussing multimodal AFM and its
applications in characterizing materials, then address multimodal STM techniques for probing molecular properties at
interfaces. We close by oﬀering perspectives on future opportunities for both research areas.
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2. Multimodal atomic force
microscopy
In a standard atomic force microscopy experiment, a sharp tip
(oen Si, with radius of curvature <10 nm) mounted on a
cantilever is rastered across the sample to measure surface
topography. A laser beam is reected from the back of the
cantilever to a quadrant photodiode, and the position of the
beam on the photodiode is used to track changes in the vertical
position of the tip as it tracks the surface topography. In contact
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Overview of multimodal AFM and STM techniques incorporating: (1) an applied bias, (2) modulation of tip position (height or tapping
frequency), or (3) an external stimulus or colocalized measurement modality.

Fig. 1

mode, the tip touches the surface, which is experimentally
straightforward and provides good spatial resolution (on the
order of 1 nm lateral, 0.1 nm vertical). For typical contact mode
imaging in air, forces applied to the sample by the tip may be in
the range from 10–100 nN, which can damage so materials.
Such materials can instead be imaged using a so cantilever
that applies forces on the order of 100 pN,24 or using tapping or
non-contact modes. In tapping mode, the AFM tip is held a
small distance (a few nm) from the surface, and the cantilever is
oscillated using an AC voltage applied to a piezoelectric actuator. These small oscillations (<10 nm) bring the end of the tip
close enough to the sample to experience repulsive or attractive
van der Waals and/or electrostatic interactions that modify the
resonance amplitude or frequency. In addition to vertical
deection, lateral tip deection can also be detected at the
photodiode. This provides a readout of the strength of frictional
forces between the tip and the surface,33,34 which can vary with
surface chemical composition (for instance, with the terminal
functional group in an alkanethiol SAM).
While contact and tapping mode have historically been the
most common imaging options in commercial AFMs, in recent
years additional imaging modes have proliferated due to the
wide interest in mapping nanoscale surface properties. Here, we
focus on methods that provide multiple types of information
about the molecule or material in the probe–sample junction.
We group these measurements into three broad classes: (1)
applying or varying a bias between the tip and the sample to
measure electrical properties, (2) modulating vertical tip position, generally used in measuring Young's modulus, adhesive
forces, and other mechanical properties important in biological
and polymeric materials, and (3) adding an external stimulus
such as IR or visible light, an ion beam, or a magnetic eld, in
order to correlate topography with the presence of chemical

7108 | Anal. Methods, 2015, 7, 7106–7127

bonds, particular molecular species, or local magnetic
properties.

2.1. Bias application and/or modulation (cAFM, EFM, KPFM,
PRFM)
For energy applications, it is frequently useful to measure
electronic transport and dielectric polarization properties at the
nanoscale, since device performance is tied to local variations in
these parameters.35,36 For instance, organic photovoltaic devices
are oen based on an interpenetrating network of two organic
materials, one that is an electron conductor and one that is a
hole (positive charge) conductor. Phase segregation of the
materials on the 10–100 nm scale is desirable to promote eﬃcient separation of excitons into unpaired electrons and holes
when the device absorbs photons.36 However, topographic
measurements alone are insuﬃcient to assess this behavior and
associated variations in local transport properties. Thus,
probing variations in conductivity, illuminated photocurrent
and work function on the sub-100 nm scale using multimodal
AFM is valuable in correlating device performance with domain
structure to increase reproducibility. Several related but distinct
methods are used to characterize these properties, broadly
based on applying a DC and/or AC bias between the AFM
cantilever tip and the substrate.12,13,37,38
2.1.1 Conductive AFM, electrostatic force microscopy and
Kelvin probe force microscopy. Local variations in charge
transport and electron and hole injection in materials for
photovoltaic and other devices can be measured simultaneously
with local topography using cAFM.1,37,39 In this conguration, a
conductive (usually metal-coated) AFM tip is rastered across the
substrate in contact mode as a bias is applied. The current
through the sample (pA to nA) is monitored to create a
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conductivity map, while tip deection is measured in the
standard way to create a topographic map. Because the
measurement is made in contact mode, care must be taken not
to damage so materials such as polymers, and tip lifetime is
limited as the metal coating can be abraded by the surface.
Lower contact forces are less likely to cause sample damage, but
can lead to less stable electrical contact, so this parameter must
be optimized for each system. Conductive AFM imaging has
been used to observe the evolution of local conductivity
networks in both electrode materials and polymer blends for
solar cells as they are subjected to a variety of processing steps
including chemical etching and thermal annealing.39–42 For
instance, Ginger and coworkers found that in poly(3,4-ethylenedioxythiophene) polystyrenesulfonate (PEDOT:PSS) thin
lms, frequently used as anode materials, relatively small
20 nm conductive domains were initially observed throughout
the lm by cAFM. The density of these conductive domains
increased both with thermal annealing and with decreased PSS
concentrations, and overall lm conductivity increased aer
washing with chlorobenzene, highlighting the importance of
controlling all aspects of lm processing.40
Local variations in surface work function, or surface potential, can impact the voltage necessary for charge injection and
extraction at electrode contacts in a photovoltaic device. Lateral
variations in work function are also important in eld eﬀect
transistors, in which the potential drops between the source
and drain electrodes.
Local surface potential may be characterized using electrostatic force microscopy (EFM)43 or Kelvin probe force microscopy (KPFM) (Fig. 2).37,44 In both EFM and KPFM, the tip is
usually rst rastered across the surface in tapping mode to
measure topography. To measure surface potential, the tip is
then retracted slightly from the surface and a bias is applied for
further imaging. At the smaller tip–sample separations (a few
nm) used for topographic imaging, van der Waals forces (fz6)
dominate tip–sample interactions. At the larger separation
distance (typically >10 nm), coulombic forces (fz2) instead
dominate, allowing them to be imaged independently from
topography. Coulombic forces arise based on the diﬀerence in
the work functions of the tip and sample materials, known as
the contact potential diﬀerence (CPD). If there is a nonzero
contact potential diﬀerence between the tip and the sample,
and the two are connected through an external circuit, electrons
will ow into the material with the larger work function until
the Fermi levels are equal. This local charging eﬀect produces
coulombic forces between the tip and the sample; tip deection
due to these forces can be measured in the standard way, based
on the position of the laser beam on the detector photodiode.
An additional bias is usually applied to the tip to further control
the total potential diﬀerence and improve sensitivity. While
both EFM and KPFM measure surface potential based on such
local capacitive eﬀects, they use somewhat diﬀerent bias and
measurement schemes, described below.
In EFM, the tip rasters above the surface in tapping mode
with a constant applied bias.43 Changes in surface potential vary
the tip–sample forces, producing a shi in the tip resonance
frequency proportional to the contact potential diﬀerence.

This journal is © The Royal Society of Chemistry 2015
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Multimodal AFM with constant or variable bias probes local
electronic properties including conductivity, local surface potential, or
local piezoelectric eﬀects.

Fig. 2

Attractive forces slightly decrease the tip oscillation frequency,
while repulsive forces increase it; this may be detected either
directly, or based on a phase shi in the oscillation.
One important application of EFM was in early studies of
semiconductor nanocrystals, which were known to exhibit
photoluminescence intermittency or ‘blinking’ behavior,
believed to be associated with photoionization. Brus and
coworkers, using EFM imaging, demonstrated that in small
(5 nm) CdSe nanocrystals, roughly half the particles carried a
positive charge under ambient conditions. The charged fraction
increased substantially when the particles were illuminated,
then decreased again when the particles were no longer illuminated.45,46 Understanding and controlling this type of photophysical behavior is important in using nanocrystals for
photovoltaic and other material applications. More recently,
EFM has also played a role in characterizing layered materials
for devices, including characterizing metal–semiconductor
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contact between ZnO and graphene for a transparent, exible
eld emission device,47 and observing electric eld screening of
substrate charges by individual MoS2 sheets.48
In contrast with EFM, KPFM applies a dynamic DC bias to
equalize the potential of the surface and the tip. The tip is not
mechanically excited, but an AC bias is applied near the tip
resonant frequency. This produces oscillating capacitive
charges on the tip and sample, exerting electrostatic forces that
cause the tip to begin to oscillate. The magnitude of the tip
oscillation at the AC frequency is proportional to the tip–surface
potential diﬀerence. Applying a DC oﬀset bias equal to the
contact potential diﬀerence equalizes the tip and surface
potentials, minimizing the tip oscillation. Therefore, as the tip
rasters across the surface, a feedback loop adjusts the DC oﬀset
dynamically to minimize tip oscillation, and the required bias is
recorded as the local CPD.
Since the CPD mapped by KPFM equals the diﬀerence between
the tip and local sample work functions, it can then be used to
extract the local sample work function. This requires the tip to be
calibrated against a reference material (such as a sputtered thin
lm of Au, or freshly cleaved HOPG) with a known work function.
Importantly, when working with materials under ambient
conditions, surface contaminants can alter the work functions of
metals (including the tip) by 0.5–1.0 eV, and can introduce surface
states and oxides on semiconductor surfaces, also changing
measured CPD values.49 Thus KPFM measurements are
frequently performed under UHV conditions when possible.

Tutorial Review

Similarly, KPFM has been utilized in examining contact
potentials in organic materials for devices, as well as in biological systems.44 Organic–inorganic contacts between electrodes and active layers in polymer devices represent an
important nanoscale chemical characterization target, since
high resistance contacts between materials with diﬀerent work
functions can dominate device performance. Friend and
coworkers examined potential drops in poly(3-hexyl thiophene) (P3HT) transistors at source and drain contacts,
nding that KPFM can be used to measure the potential in the
accumulation layer.52 They were also able to use KPFM to
screen for electrode/polymer material pairs that produce
contact resistances of less than 50 U at the source electrode,
improving device performance in polymer FETs.53 More
recently, Spadafora, Grévin and coworkers used a modied
noncontact AFM/KPFM detection scheme incorporating
damping contrast, in order to achieve sub-10 nm resolution in
KPFM measurements of a P3HT/phenyl-C61-butyric acid
methyl ester (PCBM) blend lm.50 Fig. 3a shows nanometerscale images of the surface work function of the lm, which
changes in a spatially heterogeneous manner when the lm is
illuminated with 532 nm radiation. An important aspect of
this tandem characterization of topography and electronic
properties has been the discovery that nanoscale topographic
peaks do not necessarily correlate with local peaks in lm
conductivity, highlighting the necessity of characterizing both
parameters.54 In addition to measurements of organic and
inorganic lms, KPFM has also been utilized to study charge

Fig. 3 Multimodal AFM with applied bias. (a) AFM topography and KPFM images of a polymer blend ﬁlm both unilluminated (middle) and illuminated (right), showing the change in work function for individual polymer domains. (b) AFM topography and PRFM amplitude and phase of a
nanostructured ferroelectric material, showing diﬀerences in poling directions in individual domains. Adapted with permission from ref. 50 and
51. Copyright 2010 American Chemical Society and 2013 John Wiley and Sons.
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transfer in biological systems, including photosystem 1,
quantifying the potential of the electron receptor system.55
2.1.2 Scanning capacitance microscopy. Semiconductor
conductivity is oen controlled by the addition of a small
number of dopant atoms (on the order of 1 in 106), containing
either more or less valence electrons than the intrinsic semiconductor. Controlling the spatial distribution of dopants is
important in reproducible device manufacturing.56 Because
intrinsic semiconductors such as Si and Ge form a surface layer
of native oxide when exposed to air, it may be necessary to
measure very small subsurface dopant concentrations through
this layer of insulating material.
Scanning capacitance microscopy (SCM) was originally
developed at RCA in the 1980s57 and rapidly adapted to work
with atomic force microscopes.58 In this method, a metal tip is
rastered in contact mode on an insulating oxide layer over a
semiconductor, as an AC bias is applied (10 kHz). As in the
EFM and KPFM measurements described above, this produces
capacitive charge accumulation in the semiconductor; however,
charging in this case is limited by the dopant concentration,
making it possible to measure the local dopant concentration, if
very small capacitances (<1018 farad) can be detected. This is
achieved by measuring dynamic capacitance changes, which are
easier to detect than small static capacitances. When a highfrequency (GHz) capacitive sensor is used to detect the accumulation and depletion of charge with each cycle, SCM can
detect capacitances as low as 1021 farad, registering dopant
densities from 2  1014 cm3 to 8  1019 cm3.59 Related
microwave-frequency AFM methods have more recently been
used to probe polarization in other insulating materials
including peptide maquettes with a zinc(II) protoporphyrin IX
center at electrode interfaces relevant for optoelectronic
devices, mapping changes in nanoscale impedance as the lms
are optically excited at 425 nm.60
2.1.3 Piezoresponse force microscopy. Many materials
important for both energy and biological applications have a
noncentrosymmetric crystal structure (one that lacks a center
of inversion symmetry), and therefore exhibit a property
known as piezoelectricity.61 When piezoelectric materials are
placed in an electric eld, they expand or contract slightly
along the axes of dipoles in their unit cells. Such deformations
are typically quite small – piezoelectric coeﬃcients for highly
responsive lead zirconate titanate ceramics used as actuators
(such as those used to control scanning probe tips) are on the
order of 300–600 pm V1. However, much smaller responses
can also be useful: for instance, many sensors are based on the
piezoelectric properties of quartz, which has a response of just
2.3 pm V1.62 Many biomolecules containing helical motifs are
also piezoelectric. Bone, a mixture of the helical protein
collagen and inorganic crystalline hydroxyapatite,63 is piezoactive due to its collagen content, which is believed to be
important in its mineralization process.64
Piezoresponse force microscopy is a contact modality that
measures the mechanical deformation of piezoelectric materials in response to an AC electric eld applied through the
tip.38,65 As the bias at the tip oscillates, the piezoelectric material
expands and contracts slightly under the tip; this causes the tip

This journal is © The Royal Society of Chemistry 2015
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to deect, following the motion of the sample. Sensitive detection of tip deection is required in order to track the small
motions being measured. Because ferroelectric materials
exhibit piezoelectric responses, PRFM has been used to probe
both static and dynamic poling of domains in ferroelectric
lms,66,67 as well as changes in inorganic structure, including
mapping lithium ion diﬀusion in a battery cathode.68 Fig. 3b
shows AFM topography and PRFM surface displacement maps
for nanoscale islands of ferroelectric BiFeO3 on SrRuO3/
SrTiO3,51 a material of interest for nanoscale nonvolatile
memory applications. Peaks in the PRFM amplitude correspond
to a vertical voltage-induced deformation of the material, while
peaks in PRFM phase indicate lateral deformation. In the case
shown here, application of a higher poling voltage to switch the
ferroelectric domain orientation also resulted in switching of
diode-like conductive direction in the material, as measured by
conductive AFM, with rectication ratios as high as 500 at
0.6 V. Even weakly piezoactive materials such as collagen can
be characterized by PRFM.69–71 For example, measurements of
tooth dentin have been used to elucidate collagen bril ordering
in the enamel with sub-10 nm resolution.70
2.1.4 Scanning electrochemical microscopy. Electrochemical reactions are central to fuel cells and batteries, as well
as biological energy generation and metabolism. Performing an
AFM bias experiment in liquid with a specialized tip, it is
possible to probe local variations in electrochemical processes,
referred to as scanning electrochemical microscopy AFM
(SECM-AFM).72 The scanning electrochemical microscopy
(SECM) technique, developed in 1989 by Bard and coworkers,73
utilizes an ultramicroelectrode (UME) to limit the spatial extent
of the electrochemical reaction. Typically, the UME is based on
a Pt or Au wire, or carbon ber with a diameter from a few mm to
as little as 10 nm. The body of the wire is sealed in an insulator
such as glass or Apiezon wax to localize the electrochemical
reaction to the exposed tip.74 Integrating SECM into an AFM
improves positioning feedback for the ultramicroelectrode,75,76
but levies additional requirements on the probe tip since it
must be mounted on a cantilever. UME-AFM probes have been
fabricated using a number of strategies, for instance by insulating a commercial conductive AFM probe with a material such
as parylene, followed by mechanical abrasion or focused ion
beam (FIB) processing to remove the insulating layer at the
probe tip on.75–80
The tip is then immersed in an electrochemical cell and acts
as the working electrode, which can be moved precisely relative
to the sample as a bipotentiostat controls the bias of the tip and/
or substrate relative to a reference electrode. Electrochemical
oxidation or reduction of species from solution at the tip results
in a small current (pA–nA), which increases based on the solution concentration of the molecule. If the reactive molecule is
being generated by the substrate, the current is limited by the
diﬀusion of the molecule from the substrate to the tip, and
increases as the tip approaches the surface. Other surface
features such as proteins, nanoparticles, or micro- or nanoscale
pores in a membrane may also act as sources for the electrochemically active species.76 Due to the more complex probe
structure and the fact that electron transport occurs through
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Faradaic currents in the liquid medium, this experiment
provides nm-scale vertical resolution, but substantially lower
lateral resolution (typically >100 nm) than standard AFM
experiments. SECM-AFM has been used to probe diverse
processes in which precise z-resolution and operation in solution are critical, including the dissolution of crystals,75 localized
corrosion81 and enzymatic activity,77,78 and transport through
micropores.80
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2.2. Tip height and rotation modulation (force curves and
multifrequency AFM)
Many so materials including polymers and biomolecules are
so enough to be deformed by interactions with the AFM tip,
which can be used to study mechanical properties oen integral
to their function. Here, we begin by describing force curve
measurements, in which the AFM tip is pressed into or pulled
away from the surface, to measure local hardness and adhesive
forces. Second, we discuss tapping mode experiments in which
higher harmonics (or other frequencies) are excited to measure
surface mechanical properties simultaneously with topography.
2.2.1 AFM force curve measurements. Measuring tip
deection as the tip height is decreased or increased relative to
the surface creates a force curve (Fig. 4).82–84 As the tip height is
decreased, repulsive forces with the surface begin to cause the
end of the cantilever to deect upward. Force curves can be used
to calculate elastic moduli for so materials, and have been
used extensively in characterizing the properties of polymers.85–87 For instance, cartilage has a hierarchical structure,
and diﬀerent mechanical parameters were found in AFM
indentation measurements based on tip contact area.88 Sharp
pyramidal AFM tips (radius  20 nm) measured a 100-fold lower
elastic modulus than larger spherical indenter tips (radius 

Multimodal AFM with varied tip vertical position measures local
mechanical properties including Young's modulus and elasticity.

Fig. 4
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2.5 mm), suggesting that the individual collagen brils are soer
than the collagen structure at the micrometer scale. Recently,
advances in instrument design have enabled force curves to be
collected in an automated fashion at each point to create an
image of surface mechanical properties, a capability that is now
available on some commercial instruments.
Conversely, the tip can be used to measure mechanical
behavior of single molecules, including the strength of noncovalent interactions within the molecule. If a macromolecule
such as a protein is covalently bound to both a surface and an
AFM tip (frequently through thiol–Au linkages), noncovalent
and/or covalent forces within the macromolecule will resist the
retraction of the tip from the surface, causing the cantilever to
deect downward.26,89,90 Fig. 5a shows force curves acquired
during the unfolding of domains in titin muscle protein. As the
tip is withdrawn from the surface, the force on the tip increases
(point 1) until a domain unravels (point 2), decreasing the
pulling force and forming a sawtooth pattern with a periodicity
of 25–28 nm between peaks, consistent with the length of an
extended titin Ig domain. Forces are calculated based on tip
deection, using a calibrated tip; the force required to overcome
intermolecular forces within the domain varied from 150 to
300 pN with greater forces required at faster pulling speeds
(with a range from 0.01–1 mm s1).
2.2.2 AFM molecular recognition measurements. In many
cases in biology, the strength of the interaction between a pair
of molecules is of interest, and this interaction can also be
probed directly with the AFM.92–95 In this case, the AFM tip is
functionalized with one binding partner, and the surface with
the other. This conguration has been used to detect ligand–
receptor binding events,96 antibody–antigen recognition
events,92 and the hybridization of DNA.97 For example, AFM
recognition experiments have helped to distinguish multiple
types of binding between cadherin proteins that dimerize
during cell surface adhesion.98 Bringing a cadherin-functionalized tip into contact with a lipid-coated surface containing
complementary cadherins, recognition dynamics could be
probed as controlled pulling forces were applied. The ability to
apply controlled forces during the experiment helped mimic
biological conditions as cells migrate, and suggested that
initially cells form catch bonds, which become stronger when
pulled, making them robust during migration. Over time, the
cadherin dimers relax into more permanent slip-bond structures that are strongest in the absence of stress. In performing
such experiments with functionalized tips, control over the
orientation and binding density of the functional partner on the
tip are critical in ensuring reproducible measurements, as is
control over sample hydration and tip pulling speed.99
It is also possible to simultaneously map both surface
topography and molecular recognition using an imaging
scheme in which a molecular recognition event creates attractive forces that decrease the oscillation amplitude of a probe
scanning the surface in tapping mode.99 In the experiment
shown in Fig. 5b,91 biotin is aﬃxed to the AFM tip through a
exible poly(ethylene glycol) (PEG) linker, and used to probe an
avidin-coated surface. As the tip rasters across the surface, the
lower and upper halves of the oscillation are analyzed separately
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Examples of single-molecule force curves and molecular recognition imaging. (a) Single-molecular force spectroscopy experiment
measuring forces required to unfold individual subunits of titin protein. (b) Simultaneously acquired topography and molecular recognition
imaging of a biotin-functionalized tip interacting with an avidin-functionalized surface. Avidin molecules appear as protrusions in the topography
image, and as depressions in the recognition image. Adapted with permission from ref. 89 and 91. Copyright 1997 AAAS and 2005 John Wiley and
Sons.

Fig. 5

to create two images. The lower oscillation magnitude decreases
as the tip rasters over an avidin molecule (or any surface
protrusion), due to the higher surface topography. This half of
the oscillation is used to control the tip Z height to maintain a
set point oscillation amplitude as in standard AFM tappingmode imaging. In contrast with other types of surface protrusions, when the biotin–PEG-functionalized tip rasters over an
avidin molecule, the binding interaction limits the magnitude
of the upswing of the cantilever. Therefore, the upper half of the
oscillation can be used to image molecular recognition; avidin
molecules appear as depressions in the molecular recognition
image constructed from the maxima of each oscillation.
2.2.3 Multifrequency AFM measurements. When imaging
samples in tapping mode, multifrequency AFM measurements
can be used to examine local topography and mechanical
properties (e.g. Young's modulus) simultaneously.100–102 In
standard tapping mode imaging, the cantilever is driven near
the frequency of its rst bending mode. However, higher
harmonics of the cantilever can be excited simultaneously,
leading to nonlinear tip–sample interactions that change with
sample stiﬀness.100,102 Higher harmonic excitations are typically
much smaller in magnitude (<1 nm, vs. 1–10 nm rst-harmonic
oscillations), making them more congruent with the decay
length of tip–surface interaction forces (0.5 nm).103
To some extent, higher harmonics are naturally excited as a
consequence of driving the tip at its rst eigenmode, or resonance frequency. Tip deection at higher frequencies can be
recorded along with the primary tip excitation frequency, referred
to as multiharmonic AFM imaging. However, harmonic amplitude decreases with n2, necessitating sensitive detection methods
for higher harmonics. Such resonances are most oen observed
with so cantilevers (force constants 0.5 N m1 or less) or when
imaging in liquids,104 and have been used to image live
bacteria105,106 including work by Raman and coworkers mapping
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nanoscale local mechanical properties of live cells.106 For
instance, using commercial AFM systems and cantilevers, with
the cantilever stiﬀness calibrated based on thermal noise, multiharmonic measurements were used to diﬀerentiate mechanical
properties of cells including rat broblasts and red blood cells.
Red blood cells contained a relatively stiﬀ center region (with
ksample  0.05 N m1) and a soer periphery (ksample < 0.01 N
m1), enabling the cells to deform as needed when passing
through blood vessels. Rat broblasts were stiﬀer overall than red
blood cells, and could be described in terms of Hertzian
mechanics, leading to local measured stiﬀnesses of 30–80 kPa,
with clear diﬀerences in mechanical properties corresponding to
nucleus, cytoskeleton, and actin bers.
It is also possible to excite the cantilever at multiple
frequencies directly, increasing oscillation amplitude at the
higher frequencies.101 Simultaneous excitation of both rst and
second resonant frequencies, referred to as bimodal AFM,109 has
been used to map local dissipation and stiﬀness in conjunction
with topography in so materials including proteins. For
instance, phase shis in the second exural mode (2nd
harmonic) have been used to detect the presence or absence of
5 nm magnetic iron oxide nanoparticles inside a peptide shell,
distinguishing between ferritin and apoferritin proteins with
similar topography (Fig. 6a).110 The method has also been used
to map protein structural exibility in antibodies, providing
sub-2 nm spatial resolution in liquid, using forces as small as
30–40 pN. Elastic modulus variations were observed across a
single antibody, from 8 MPa at the end of the arm to as high as
18 MPa at the central protrusion.111 When multiple modes are
excited, it is also possible to detect at an intermodulation
frequency—for instance, the diﬀerence between the two
frequencies—which can decrease the required detection bandwidth,112,113 or at one or more oﬀ-resonance frequencies, which
can increase sensitivity.114
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Alternatively, it is possible to perform broadband excitation of
the cantilever and detect amplitude or phase shis throughout
the range of frequencies to determine multiple mechanical or
frequency-dependent properties, simultaneously.115 The technique has been applied to both so and inorganic materials,
distinguishing between damping, Young's modulus, and electromechanical properties in biomaterials, and assessing ion migration in a lithium ion battery cathode with 100 nm resolution.68 In
these experiments, grains of LiCoO2 with diﬀerent orientations
relative to the imaging plane exhibited enhanced displacement at
a range of resonant frequencies from 360 to 400 kHz, corresponding to diﬀerent local out-of-plane Young's moduli.
2.2.4 Non-longitudinal bending modes. Although longitudinal bending modes of the cantilever are usually excited for
imaging, other types of deection can also be used to image
mechanical properties of the sample including stiﬀness. For
example, torsional deection across the short axis of the cantilever can be measured, known as lateral force microscopy (LFM),
which measures frictional forces as the tip rasters the surface.
Whitesides and coworkers used this technique in early experiments demonstrating the ability to diﬀerentiate between nanoscale areas of a chemically patterned surface containing areas of
both methyl-terminated alkanethiols and carboxylic acid-terminated alkanethiols on Au(111).33 Carboxylic acid-terminated
areas of the surface exhibited greater lateral deection of the
AFM tip characteristic of higher frictional forces.
Torsional resonances can also be excited in tapping mode (in
contrast to static torsional deections due to frictional forces
with the surface). Such resonances can be achieved using a
specialized T-shaped tip design in which the AFM tip is positioned oﬀ-center near the end of the crossbar. As the tip rasters
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the surface in tapping mode, longitudinal deections are used to
track surface topography, while torsional deections vary with
surface stiﬀness. This conguration has been used to characterize local mechanical properties of DNA116 and proteins.117 In
one such experiment, local stiﬀness was measured in a microarray of DNA designed to detect diﬀerences in microRNA levels
corresponding to human colon and bladder tumor cell lines.
Measured local stiﬀness ranged from 5 GPa to 3 GPa depending
on the hybridization state of each DNA molecule, making is
possible to measure individual hybridization events.116
In a multimodal AFM technique known as AFM holography, the
sample is subjected to vibrations, which are variably damped based
on local structure.118,119 Measuring this local damping using an
oscillating cantilever can detect subsurface structural variance in
living cells119,120 or in so materials108 with lateral resolution on the
10–100 nm scale and depth resolution for some types of subsurface
features. This is signicant, since scanning probe methods in
general are most sensitive to surface topography and chemistry.
Fig. 6b shows this technique utilized to observe nanoscale silica
particles buried in mouse alveolar cells aer the mouse was
exposed to the particles by inhalation.108 In this case, the cells were
excited using ultrasonic energy at 3.950 MHz, and the AFM cantilever was oscillated at a slightly higher frequency (4.217 MHz);
coupling between oscillations created a phase signal revealing
locations of subsurface silica particles.
2.3. Application of external stimuli (electromagnetic
radiation, heating, mass spectrometry, magnetic elds)
To extract additional information from samples, scanning
probe imaging can be applied in tandem with or colocalized
with another modality. One important example is the

Fig. 6 Examples of multimodal AFM exciting multiple resonant frequencies. (a) Bimodal AFM exciting both ﬁrst and second cantilever harmonics
to image ferritin proteins with and without iron oxide nanoparticle cores. First harmonic image reveals surface topography, while second
harmonic provides contrast showing the presence or absence of the magnetic nanoparticle within the protein. (b) AFM holography reveals
subsurface features with diﬀerent mechanical properties by applying vibrations to the sample, and detecting transmission of the vibrations to the
tip. Standard AFM image (left) shows surface topography of rat alveolar cells, while holography image (right) reveals the presence of sub-surface
silica nanoparticles. Adapted with permission from ref. 107 and 108. Copyright 2006 National Academy of Sciences and 2008 AIP Publishing LLC.
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measurement of photoconductance in thin lms using cAFM
while the lm is irradiated with visible light, as discussed in the
section on electrical measurements. Here, we will discuss four
additional applications. First, we discuss the incorporation of
Raman or IR spectroscopy in combination with a scanning
probe to characterize local chemistry simultaneously with
topography. These methods are useful for detecting defects in
carbon nanomaterials for energy applications, as well as local
variations in peptide structures. Second, magnetic elds can be
applied in tandem with scanning probes to characterize
magnetic domain structure (useful in nanoscale memory
applications) and electron and nuclear spin (for both inorganic
and so/biological materials). Third, local sample heating
using a scanning probe can be utilized to characterize local
phase transitions in polymers for energy applications. Finally,
we discuss performing co-localized mass spectrometry imaging
to correlate topographic features with the presence of species
with characteristic masses, useful for both polymeric and biological materials.
2.3.1 Raman and infrared spectroscopy with AFM.
Combining Raman or IR spectroscopy with scanning probe
microscopy oﬀers the possibility of locally probing both topography and chemical structure (Fig. 7).121–124 Perhaps the most
widely used commercial capability integrates a confocal Raman
microscope with a standard AFM, performing the two
measurements in sequence to acquire surface topography at
nanometer resolution in conjunction with diﬀraction-limited
Raman spectra. This capability has been widely utilized to probe
the structure of single- and multi-layer graphene as well as
microcrystalline inorganic materials. Fig. 8 shows a bilayer graphene nanoribbon created from a plasma-etched carbon nanotube imaged by AFM and confocal Raman microscopy in the
graphene G band (1582 cm1).125 Full spectra acquired over the
nanoribbon (right) reveal a broadened 2D peak (2700 cm1,
inset) characteristic of an AB-stacked bilayer structure, which
chemically diﬀerentiated it from other imaged nanoribbons
with narrow 2D bands characteristic of monolayer graphene.
Although Raman spectroscopy on graphene is relatively
straightforward due to its large scattering cross-section, most
molecules scatter more weakly (1 in 106 photons is common),
and are more diﬃcult to image in nanometer-thick lms.
Additionally, for some applications it is desirable to resolve
features below the diﬀraction limit. In tip-enhanced Raman
spectroscopy (TERS), a noble metal AFM or STM tip can be
utilized to create a large local electric eld gradient that
enhances Raman scattering; when a metal tip is used to image
samples on a metal surface, the eld in the gap can produce
Raman enhancement factors up to 108, suﬃcient to detect an
individual molecule or nanostructure with a large Raman
scattering cross-section. Although AFM-TERS imaging typically
does not provide spatial resolution suﬃcient to resolve single
molecules, it has been applied in characterizing phase-segregated polymer blends on the 10–100 nm scale, as well as performing sub-diﬀraction imaging of carbon nanotubes. For
instance, the chirality of individual carbon nanotubes has been
established by AFM-TERS based on diﬀerences in radial
breathing modes.126,127 Because tip-enhanced Raman
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spectroscopy (TERS) can be performed with either STM or AFM
tips, with similar experimental considerations, we provide a
more extensive discussion of TERS in the STM section.
Infrared radiation is widely used to probe molecular structure due to the diversity of IR-active bonds found in organic
materials. However, the relatively long wavelengths (2.5–20 mm)
associated with IR typically restrict the spatial resolution of this
information to micron length scales. Utilizing the scanning
probe tip either for near-eld enhancement,128 similar to TERS,
or to track local sample heating and expansion due to IR
absorption, provides a means to localize chemical structural
information at the sub-100 nm scale, well below the diﬀraction
limit.122 Fig. 8b shows the scattering scanning near-eld optical
microscopy (s-SNOM) conguration, in which a metal-coated
AFM tip is used to provide a local eld enhancement to localize
IR radiation. In the conguration illustrated, synchrotron

Multimodal AFM incorporating external stimuli or a colocalized
measurement modality can be used to collect local information about
the presence of speciﬁc chemical bonds, chemical species with
speciﬁc masses, local phase transition temperatures, or thermal
expansion.
Fig. 7
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radiation is used in order to sample across an especially wide
range of the IR spectrum. The center panel of Fig. 8b shows a
spectrum taken over a nanoscale spot in a peptoid (poly-Nsubstituted glycine) sheet , revealing the characteristic amide I
absorption peak at 1650 cm1. Overlaying a 3D AFM topography
map of the surface with the scattering intensity at this wavelength reveals the locations of peptoid sheets across the surface.
Such measurements are also relevant to inorganic materials—
similar scattering geometry utilizing a continuum source was
recently used both to launch and detect plasmons in graphene
nanoribbons.129
2.3.2 Magnetic elds coupled to AFM. Magnetic elds can
also be applied during imaging to probe local structure.1,132 In
magnetic force microscopy (MFM), a magnetic tip (frequently
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silicon coated with FeCr or a similar material) is used to probe
the local magnetic domain structure of a sample. Similar to
EFM, a common li-mode imaging scheme involves scanning
the surface under conditions typical for AFM topography
imaging, then withdrawing the tip 10–100 nm (to reduce the
impact of electrostatic and van der Waals interactions) and
re-scanning the surface to produce the magnetic force image.
The li height between passes in this imaging scheme will
impact the measured magnetic signal strength – greater li
heights decrease the magnetic signal, but can also increase
signal-to-noise ratio for some samples. The technique has been
used to image local magnetic structure in a variety of materials,
ranging from room-temperature semiconductors133 to magnetic
nanocrystal lms.131 In the case of cobalt nanocrystal lms, of

Fig. 8 Multimodal AFM employing external stimulus. (a) AFM with confocal Raman imaging of a bilayer graphene nanoribbon (GNR). Raman
spectrum over GNR shows broadened 2D peak characteristic of bilayer graphene. (b) AFM-IR using synchrotron radiation to illuminate an AFM
tip, which provides near-ﬁeld enhancement. A spectrum collected over a nanoscale area of a peptoid sheet on the substrate exhibits the
characteristic peptide amide I band at 1650 cm1. Overlaid AFM and IR images provide sub-diﬀraction localization of the peptoid sheets on the
substrate. (c) Colocalized AFM and MFM images of a cobalt nanocrystal ﬁlm reveal domains 100 nm in diameter with shared magnetization. (d)
MS-AFM optical micrograph (left) of Pseudomonas GM15 colony including crystalline material imaged by AFM-MS. Mass spectrum (middle) of
phenzaine-1-carboxamide, showing protonated peak at m/z 224. AFM-MS image (right) overlays intensity of peak at m/z 224 as a color gradient
on the 3D AFM image, providing chemical contrast highlighting the likely locations of P1C crystals. Adapted with permission from ref. 125, 128,
130 and 131. Copyright 2009 Macmillan Publishers Ltd, 2014 National Academy of Sciences, 2014 American Chemical Society, and 2004
Macmillan Publishers Ltd.
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interest for ultra-high-density recording media, MFM was used
to identify the presence of correlated areas of parallel magnetization 100 nm in diameter, within a lm consisting of 12 nm
Co particles, and to visualize the evolution in domain structure
with consecutive scans (Fig. 8c).
Magnetic elds can also be applied locally in unconventional
ways to provide new types of nanoscale structural information.
Magnetic resonance force microscopy (MRFM)134,135 aims at
providing spatially resolved information on electron or nuclear
spins equivalent to a nanoscale version of magnetic resonance
imaging. In this technique, a magnetic tip applies a large local
magnetic eld gradient (on the order of 106 T m1) that, in
combination with a strong uniform magnetic eld (a few Tesla),
creates a region of aligned spins in the sample with a characteristic Larmor frequency that can be detected based on an RF
pulse. Single electron spins in inorganic materials such as CaF2
have been detected using this methodology.136 Larger numbers
of proton nuclear spins have also been imaged with <25 nm
resolution, suﬃcient to analyze structure in large biological
macromolecules such as tobacco mosaic virus.137
2.3.3 Local sample heating measurements. The AFM probe
can be used to apply heat as well as to assess phase change
temperatures or expansion coeﬃcients in materials such as
polymers.138 Controlled doping of a Si probe can be used to
selectively heat the probe tip by increasing the resistance in that
area, localizing heating of the sample to an area roughly 200 nm
in diameter.139 Conversely, for materials with known thermal
expansion coeﬃcients, AFM deection can be used as a readout
for the temperature of the sample, known as scanning Joule
expansion microscopy (SJEM).140–142 For instance, SJEM
measurements taken as current owed through a graphene
device revealed small temperature increases at wrinkles, and
much larger temperature changes (100 K) at grain boundaries,
which was used to estimate the grain boundary resistivity.141
2.3.4 Mass spectrometry coupled to AFM. Another avenue
for multimodal characterization of local chemical structure is to
couple scanning probe imaging with 2D or 3D mass spectrometry
imaging (Fig. 8d).130,143–147 This measurement correlates surface
topography with the presence of characteristic mass fragments to
identify regions containing molecules of interest on the surface.
Two general strategies have been exploited in this regard. One
performs the two types of imaging sequentially, imaging surface
topography both before and aer secondary ion mass spectrometry (SIMS) imaging to enable registration of the two
images.145–147 In one conguration, a small AFM is mounted
inside the vacuum chamber of a secondary ion mass spectrometer, with a custom high-precision sample stage that can be
rotated 180 to switch between measurement modalities. Spatial
resolution for SIMS imaging is as good as 50 nm laterally, and the
sample can be maintained under low-temperature vacuum
conditions for AFM imaging, removing the possibility of surface
remodeling or contamination under changing environmental
conditions. The integrated scanning probe also enables surface
topography to be scanned aer each sputtering pass, meaning
that it is possible to compensate for variable sputtering rates for
diﬀerent materials. This method has been used to improve 3D
mapping in polymer blend surfaces consisting of poly methyl
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methacrylate (PMMA)/polystyrene (PS), which erode at very
diﬀerent rates.146
A second set of strategies couples the scanning probe with the
ionization process, collecting information about both surface
topography and local chemistry simultaneously. This reduces
the challenges in registering the two imaging modalities, while
levying additional requirements on the probe or sample. One
such approach uses a heated cantilever to locally vaporize analytes from the sample surface, then uses the vacuum draw of an
electrospray ionization (ESI) mass analyzer to transport the
vaporized sample away from the tip–sample junction.130,143 This
approach has been used to sample the surface of bacteria plated
on agar with 2 mm lateral resolution in the MS. Fig. 8d shows an
optical micrograph of the bacterial colony, including crystals of
phenazine-1-carboxamide (P1C), a green metabolite characteristic of the Pseudomonas GM15 strain. Overlaying 3D AFM
topography images with color coding showing the relative
intensity of the mass spectral peak at m/z 224 (characteristic of
protonated P1C) provides chemical contrast indicating likely
locations of P1C crystals across the surface.

3. Scanning tunneling microscopy
(STM)
In scanning tunneling microscopy, an atomically sharp metal
tip (usually Pt/Ir or W) is raster scanned across a sample at a
tip–sample separation less than 1 nm, a distance at which the
electronic wave functions of the tip and the sample begin to
overlap. When a small positive bias (on the order of 1 V) is
applied to the sample, electrons are able to tunnel from
occupied electronic states in the tip to empty states in the
sample. Conversely, at a negative sample bias, electrons
tunnel from occupied sample electronic states to empty tip
states. In the commonly used constant-current mode, the
contrast of surface features is gauged based on the tip height
necessary to maintain a constant tunneling current (pA–nA),
which provides sub-nanometer resolution due to the exponential decay of the tunneling probability as the tip–sample
distance increases. The STM provides excellent lateral and
vertical spatial resolution (oen 0.1 nm or better), yet a standard STM image – a convolution of heights and the local
density of states (LDOS) around the Fermi level – is oen
inadequate to uniquely ngerprint individual molecules on a
surface. Therefore, substantial eﬀorts have been made to
design additional STM-based modalities that enable extraction of electronic, chemical, and magnetic information from
the surface with nanoscale resolution. Three main approaches
discussed here are: (1) voltage modulation used to probe
electronic or vibrational energy levels of the molecules in the
junction, (2) modulation of tip–sample distance, and (3)
application of an external stimulus such as light or a magnetic
eld at the tunneling junction (Fig. 9).
3.1. Bias modulation (dI/dV, IETS, and microwave)
While a standard STM image involves rastering the tip across
the sample while maintaining a constant bias, one method for
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probing molecular electronic structure is to modulate the tip–
sample bias (typically within the range of 2 V to 2 V) while
measuring the tunneling current. This class of measurements is
broadly referred to as scanning tunneling spectroscopy
(STS).148,149 Frequently, STS is performed aer taking a standard
STM image to identify features of interest and then engaging
the tip at a series of desired points; however, it is also possible
to perform a spectroscopic measurement at each pixel, given a
suﬃciently stable instrument,150,151 or to use a high-frequency
modulation to collect more targeted electronic information at
each point simultaneously with the standard STM image.152
3.1.1 Diﬀerential conductance spectrum (dI/dV). Diﬀerential conductance measurements can be used to establish the
highest occupied molecular orbital (HOMO) and lowest unoccupied molecular orbital (LUMO) levels of molecules at an
interface. In this conguration, the tip is held stationary above
the surface, and the feedback loop is disengaged to maintain a
constant tip–sample distance. The voltage is then ramped
linearly through small bias range, on the order of a few volts
(Fig. 10a). The tunneling current is proportional to the number

Fig. 9
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of conductance channels, which increases as more electronic
orbitals lie at energy levels suitable for tunneling. This increase
in conductance appears as a small step in the I–V plot (red trace
in Fig. 10a, middle), and as a more noticeable peak in a plot of
dI/dV vs. V (blue trace). Electronic states involved in tunneling,
typically the HOMO and LUMO (separated by a gap of 3 eV in
large aromatic molecules), will appear as peaks at energy levels
related to the tip–sample bias. This technique is one of the most
widely used capabilities of STM and has been used to probe the
energy levels in a number of samples ranging from atoms to
simple molecules and more complex composite materials.153–158
Electronic states around the Fermi level revealed by the dI/dV
spectrum with nanoscale spatial resolution have been particularly useful in characterizing materials for electronic devices. For
instance, Wolf et al. examined the electronic structure of colloidal
Si nanocrystals (Si-NCs) of varying size and surface functionality,
observing doping eﬀects in the Si electronic structure when Ncontaining functional groups were used as ligands.155
Electronic energy levels of a molecule adsorbed to a
conductive surface oen shi due to interactions with the

Multimodal STM employing bias modulation, tip height modulation, or an external stimulus.
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substrate. Obtaining the native electronic structure of a sample
can be facilitated using a thin insulator lm (e.g. a bilayer of
NaCl) to decouple the sample from the conductive substrate.
Gerhard Meyer and coworkers have used this strategy to determine HOMO and LUMO energy levels as well as mapping the
orbital shapes of pentacene molecules on a bilayer of NaCl on
Cu(111) by imaging at the corresponding biases (Fig. 10a).159
Enhanced resolution of the molecular orbital map was achieved
with a pentacene functionalized tip. Further experiments also
visualized the tautomerization of a molecular switch, naphthalocyanine, whose electronic density shis with the orientation of the center proton pair.160
3.1.2 Inelastic electron tunneling spectroscopy (IETS). In
addition to detecting molecular electronic energy levels, STS can
also be used to probe vibrational transitions.162 Vibrational
modes, which normally occur at energies <400 meV, appear as
peaks in the plot of d2I/dV2 vs. V (Fig. 10b), also referred to as the
inelastic electron tunneling spectrum. Unlike conventional
vibrational spectroscopic techniques, IETS selection rules have
not been fully elucidated, though there is known to be some
preference for bonds with dipoles oriented perpendicular to the
surface plane.163 Interpretation of the IET spectrum is somewhat
simplied by the fact that vibrational bands are normally only
observed at the fundamental frequency.164 Due to the relatively
small vibrational energies being probed, the sample analysis
must be performed under vacuum at cryogenic temperatures in
order to minimize thermal broadening of vibrational peaks. To
increase sensitivity, a small bias modulation is applied at kHz
frequencies on top of the linear bias ramp and detected using a
lock-in amplier. IETS-STM has found many applications in
surface chemistry,165–168 inelastic tunneling-induced single
molecular manipulation and reactions,169–173 and analysis of
molecular structure.161,174–177 For instance, an STM tip has been
used to vibrationally heat (390 mV, 300 nA) a single propene
molecule adsorbed on Cu(211), inducing dehydrogenation
without disturbing neighboring molecules.171 The capability of
IETS to target a single molecule for detection and manipulation
opens up many possible uses, particularly in developing molecular-scale nanostructures.
The IETS signal can also be mapped spatially for visualization
of orbitals related to a specied vibrational mode.176 Fig. 10b
shows an experiment in which carbon monoxide (CO) and cobalt
phthalocyanine (CoPC) are deposited on an Ag(110) substrate
and imaged by STM. An IETS spectrum of CO shows a hindered
translation peak at 2.8 mV. Picking up a single CO molecule with
the STM tip and subsequently acquiring IETS spectra both over
the Ag(110) substrate and over a CoPC molecule shows that the
2.8 mV peak shis to 1.7 mV when the CO-functionalized tip is
positioned over a bond in a CoPC molecule. Performing IETS
mapping across the entire surface at 1.7 mV then reveals the
location of the bonding network in the CoPC molecule.161
3.1.3 Microwave-modulated STM. In the previous sections,
we have discussed voltage modulation techniques that involve
linear ramping of the tunneling bias. Another approach
(Fig. 10c) involves mixing the usual DC bias with a small AC bias
with a frequency (0.5–20 GHz) much higher than that of the
feedback loop controlling position (1 kHz)152 and measuring a
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downconverted modulation (fA) in the tunneling current (pA).
This modulation, which varies with the polarizability of the
molecules in the tunneling junction, can be collected simultaneously with the topographical data, using a lock-in amplier.
This capability has been used in the area of molecular electronics to image buried interfaces, characterizing the electronic
state of an oligo(phenyleneethynylene) (OPE) molecular switch
in the moments just prior to switching.152 Fig. 10c shows standard STM and microwave polarizability images of the same
region, in which OPE molecules in the high-conductance ‘on’
state appear as high-contrast features in the microwave image,
but those in the low-conductance ‘oﬀ’ state do not. Time series
images of a single OPE molecule indicate uctuations in
polarizability occurring just prior to switching, suggesting a
change in surface contact leading up to the switching event.
Microwave modulation of the eld at the tunneling junction
can also be performed using an antenna.178,179 Similar to the
scanning capacitance AFM capability discussed earlier, this
conguration has been used for dopant proling in semiconductors, to measure capacitance in conductive organic
lms;178,180 it has also been utilized to detect the spin-ip energy
of Cr(001) using an iron-coated tip.179
3.2. Tip height modulation (I–z spectroscopy)
Unlike AFM, in which force vs. tip-height is commonly
measured, current vs. tip-height (I–z spectroscopy) is less
routinely utilized in STM, though the modality can be employed
to measure the work function of the tip based on the tunneling
decay constant, as an indicator of tip quality.149 More recent
work by Manassen and coworkers suggests that it is also
possible to characterize the elastic moduli of nanoparticles in
this manner, similar to an AFM force curve measurement.181
In a non-imaging context, observing the current dependence on
the tip–sample separation is commonly used for STM-based break
junction experiments to analyze conductance through a single
atom182 or molecule.183–185 Early measurements by Besenbacher
and coworkers using this technique characterized the conductance
quantum, G0 (¼2e2/h), for a single gold atom (77.48 mS), providing
an important correlation between theory and experiment.186 More
recent experiments have analyzed conductance in a wide variety of
conjugated molecules of interest for molecular electronic applications, including alkanethiols, small aromatic functional molecules including pyridines, and larger functional molecules
including oligo(phenyleneethylene)s.19,184,187–189 Conductance in
such molecules can vary signicantly based on the molecule–metal
binding geometry; the break junction measurement is amenable
to automated collection of thousands of conductance measurements to average out such variations.188,190,191
3.3. Application of external stimuli (magnetic eld and
electromagnetic radiation)
3.3.1 Magnetic eld
3.3.1.1 Spin-polarized scanning tunneling microscopy (SPSTM). Magnetic properties of a material can be probed by
introducing a magnetic eld at the tunneling junction. In spinpolarized STM, a magnetic tip is used to image domain
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Fig. 10 Multimodal STM employing bias modulation. (a) dI/dV spectroscopy identiﬁes the HOMO and LUMO energy levels of a pentacene
molecule adsorbed to an insulating bilayer of NaCl on conductive Cu(111). Subsequent STM imaging of a pentacene molecule at a bias corresponding to the energy level of the HOMO, the LUMO, and an intermediate bias in the gap produce images correlated with HOMO and LUMO
orbital shapes as calculated using DFT. (b) IETS and IETS mapping. Using an STM tip modiﬁed with a single CO molecule allows the surface to be
imaged with chemical contrast using a bias corresponding to a vibrational excitation of the CO molecule. IETS spectra acquired at several points
over the molecule reveal that the CO hindered translational mode at 2.8 mV shifts to 1.7 mV when the tip sits over a bond in a cobalt phthalocyanine molecule on the Ag(110) surface. Imaging an individual CoPC molecule at 1.7 mV produces a skeletal image of the CoPC bond structure.
(d) Microwave frequency bias modulation provides a simultaneously acquired second data channel showing polarizability of the molecule in the
junction. Highly polarizable OPE molecules appear in high contrast against a background of less polarizable alkanethiols. Adapted with permission
from ref. 152, 159 and 161. Copyright 2010 American Chemical society, 2005 American Physical Society, and 2014 AAAS.

structure in a ferromagnetic or antiferromagnetic material at
the sub-nanometer scale. The magnetic eld in the tunneling
junction causes electron spins in the material to align parallel
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or antiparallel to the eld; the probability of tunneling varies
with the spin alignment in the material, reaching a maximum
when spins in the sample are parallel with those in the tip, and
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a minimum when they are antiparallel.192,193 This spin-polarized
tunneling current increases or reduces the apparent height of
features in the STM image. Spectroscopic data across a range of
applied biases can be used to further analyze the dependence of
electron energy levels on the magnetic eld and to measure the
spin-dependent conductance of the material.
SP-STM is commonly used in characterizing nanostructured
magnetic materials for memory storage applications and
quantum
computing,194,195
including
monolayer
Co
islands,196,197 Fe–Cu dimers,194 and organic–ferromagnetic
hybrid interfaces.196 Fig. 11 demonstrates contrast between
small islands of Co atoms on Ir(111) due to magnetic-eldinduced spin alignment.197,198 While both islands appear with
similar apparent height in the standard STM image, application
of an external 0.6 T magnetic eld while dI/dV imaging with an
Fe-coated W tip causes the two islands to appear diﬀerent based
on the alignment of the spins with (red) or against (purple)
those in the STM tip. SP-STM has also been utilized to write
magnetic bit data ve-atom Fe complexes on Cu(111).195,199
3.3.1.2 Using a non-magnetic tip. It is also possible to probe
magnetic materials by applying an external magnetic eld and
imaging with a standard metal tip. A step in the dI/dV spectrum
is observed, corresponding to the Zeeman energy (the energy
diﬀerence between parallel and antiparallel spin states) which
is proportional to the magnetic eld strength.200,201 For instance,
the Stroscio group has used IETS to probe the spin-ip excitation of individual manganese atoms or atomic chains decoupled from a substrate, demonstrating the utility of the
technique for developing magnetic storage devices. As with
NMR spectroscopy, applying strong external elds increases
spectroscopic resolution.202 Imaging with an external eld of 15
T at temperatures of 10 mK enabled the group to distinguish
four normally degenerate quantum states of Landau levels of
graphene (DE  10 meV).203
In certain cases, unpaired spins in molecules can also be
probed in a single-molecule electron spin resonance (ESR)
experiment, useful for demonstrating the presence of individual
organic radicals at an interface.204–207 Spin precession of the
electron creates radio-frequency modulation (500–600 MHz at
200 G) in the tunneling current, which appears as a noise peak
in a spectrum analyzer. For instance, Mugnaini et al. measured
the Larmor frequency of individual tris(2,4,6-trichlorophenyl)
methyl (TMM) radicals on Au(111) at 254.7 MHz, showing the
preservation of its unpaired electron even aer adsorption.
3.3.2 Electromagnetic radiation
3.3.2.1 Tip-enhanced Raman spectroscopy (TERS). TERS-STM
combines the ngerprinting ability of Raman spectroscopy with
the nanoscale spatial resolution of the STM,208 useful in
analyzing interfacial materials such as solar cell membranes,123
biomolecules,209 and carbon nanomaterials.210,211 Raman spectroscopy is sensitive to changes in polarizability caused by bond
vibration, complementary to infrared (IR) spectroscopy, in
which changes in dipole moment are detected due to asymmetric bond vibrations. Because the native Raman scattering
probability is quite low (1 in 106 photons scattered in bulk),
Raman spectroscopy is oen implemented in a conguration
that enhances the local eld gradient in the vicinity of the
This journal is © The Royal Society of Chemistry 2015
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molecules being measured to increase scattering. Surface
enhanced Raman spectroscopy (SERS) takes advantage of a
rough metal surface to increase signal intensity in this way.
Large enhancements can also be achieved in a nanoscale gap
(typically 1 nm) between metals due to the extremely large eld
gradient. Both STM and AFM tips can be used to create such a
nanoscale gap when used in conjunction with a metal substrate.
In TERS-STM, a chemically etched Au or Ag tip is engaged with
the surface and irradiated, creating 100 nm2 of enhanced local
electromagnetic with a Raman scattering enhancement factor of
up to 106.212 While typical resolution for TERS-STM is
15 nm,210,213 the resolution can be improved to 1–2 nm if the
local plasmon resonance matches the wavelength corresponding
to the electronic transition energy.211,214 TERS-STM has also
achieved single molecular sensitivity,212,215–217 although the
intensity of the Raman signals depends on the relative orientation of the dipole and the electromagnetic eld, potentially
producing large signal uctuations.215,218
While many researchers have taken advantage of low
temperature UHV environments for improved resolution and
reduced photobleaching,213,216 less restrictive ambient conditions are preferred for analyzing certain types of samples.210
Zenobi and coworkers simultaneously obtained STM and TERS
images of nanotapes formed from b-amyloid(1–40) peptides
under ambient conditions (Fig. 12a).218,220 While the amide I
band was missing from the Raman spectrum due to misalignment between the polarization of the external eld and that of
the peptide amide bond, the aromatic ring breathing mode
(1004 cm1) was evident. Thin nanoribbons appearing with low
contrast in STM images were recognized by TERS images based
on this form of chemical contrast.

Fig. 11 Multimodal AFM employing magnetic ﬁeld. STM image
showing two islands of Co atoms on Ir(111). Application of a 0.6 T
magnetic ﬁeld and dI/dV imaging at 250 mV reveals diﬀerences in
conductances of the two islands based on spin alignment with (red) or
against (purple) the orientations of spins in the magnetic Fe-coated-W
STM tip. Adapted with permission from ref. 197. Copyright 2011
American Physical Society.
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Examples of multimodal AFM employing external stimuli. (a) Standard STM and STM-TERS images of amyloid peptide ﬁbrils, which exhibit
chemical contrast in the TERS image based on the aromatic ring breathing mode at 1004 cm1. (b) Standard and X-ray STM showing chemical
contrast from few-nm Ni clusters on Cu(111). Adapted with permission from ref. 218 and 219. Copyright 2013 and 2014 American Chemical
Society.
Fig. 12

3.3.2.2 X-ray coupled STM. Synchrotron X-ray scanning
tunneling microscopy (SXSTM) correlates surface structure with
chemistry221,222 by probing core electrons whose energy levels
depend on elemental identity. Absorption of X-ray photons
(10 keV) results in emission of photoelectrons and enhanced
tunneling current due to the excitation of secondary electrons to
the electronic states near the Fermi level.178 The X-ray beam
illuminates both a relatively large area of the sample (on the
order of 100 mm  100 mm) as well as the STM tip. Therefore,
localizing detection of photoelectrons (with resolution as good
as 2 nm) and maintaining a stable tunneling junction requires a
specialized tip design that shields the tip, either with an insulating SiO2 layer, or with both an insulating layer and a metallic
layer,219,223 eﬀectively creating a coaxial shield up to the few nm
closest to the tunneling junction. The sum of X-ray induced
photocurrent and conventional tunneling current is recorded,
and later ltered for deconvolution. Using this experimental
design, nm-scale nickel clusters on a Cu(111) surface could be
chemically distinguished based on the spatial map of X-ray
induced tunneling current, though the number of Ni layers
could not be determined based on the X-ray map (Fig. 12b).

4. Conclusions and prospects
Over the past 30 years, a profusion of new instrumental
methods incorporating scanning probes have opened unexpected new possibilities for imaging structures of molecules
and materials directly in real space. The ability to observe
skeletal bond structure within an individual molecule,31,161 track
the motion of a molecular machine,28 or to irradiate a solar cell
and observe local photoconductivity13 have been transformative
across elds from biology to materials science. Many multimodal scanning probe capabilities, including conductive AFM
and force curve imaging, have already been incorporated into

7122 | Anal. Methods, 2015, 7, 7106–7127

commercial instruments, making them widely available to
analytical researchers.
In the coming decade, we expect an increased focus on
resolving complex chemical structural elements in the 5–10 nm
regime, a size scale relevant to both biology and materials
science, to meet developing needs in protein structure elucidation, electronics, and renewable energy. While both STM and
AFM can provide high-resolution images of relatively simple
molecules, and AFM can routinely provide chemical contrast at
larger length scales, there are still substantial opportunities for
progress in developing broadly applicable methods for
resolving nanometer chemical features within larger 5–10 nm
structures.
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Lett., 2010, 10, 3337–3342.
51 S. Hong, T. Choi, J. H. Jeon, Y. Kim, H. Lee, H. Y. Joo,
I. Hwang, J. S. Kim, S. O. Kang, S. V. Kalinin and
B. H. Park, Adv. Mater., 2013, 25, 2339–2343.
52 L. Burgi, H. Sirringhaus and R. H. Friend, Appl. Phys. Lett.,
2002, 80, 2913–2915.
53 L. Burgi, T. J. Richards, R. H. Friend and H. Sirringhaus, J.
Appl. Phys., 2003, 94, 6129–6137.
54 D. C. Coﬀey, O. G. Reid, D. B. Rodovsky, G. P. Bartholomew
and D. S. Ginger, Nano Lett., 2007, 7, 738–744.
55 I. Lee, J. W. Lee, A. Stubna and E. Greenbaum, J. Phys. Chem.
B, 2000, 104, 2439–2443.
56 C. C. Williams, J. Slinkman, W. P. Hough and
H. K. Wickramasinghe, Appl. Phys. Lett., 1989, 55, 1662–
1664.
57 J. R. Matey and J. Blanc, J. Appl. Phys., 1985, 57, 1437–1444.

Anal. Methods, 2015, 7, 7106–7127 | 7123

57
View Article Online

Published on 06 July 2015. Downloaded by Purdue University on 01/05/2016 23:47:08.

Analytical Methods

58 C. C. Williams, W. P. Hough and S. A. Rishton, Appl. Phys.
Lett., 1989, 55, 203–205.
59 C. C. Williams, Annu. Rev. Mater. Sci., 1999, 29, 471–504.
60 K. Kathan-Galipeau, S. Nanayakkara, P. A. O'Brian,
M. Nikiforov, B. M. Discher and D. A. Bonnell, ACS Nano,
2011, 5, 4835–4842.
61 A. West, Solid State Chemistry and its Applications, Wiley,
New York, 1984.
62 Numerical Data and Functional Relationships in Science and
Technology. Ferroelectrics and Related Substances,
Subvolume a: Oxides, ed. K.-H. Hellwege and A. M.
Hellwege, Springer-Verlag., Berlin, 1981.
63 E. Fukada and I. Yasuda, J. Phys. Soc. Jpn., 1957, 12, 1158–
1162.
64 C. Halperin, S. Mutchnik, A. Agronin, M. Molotskii,
P. Urenski, M. Salai and G. Rosenman, Nano Lett., 2004,
4, 1253–1256.
65 S. V. Kalinin and D. A. Bonnell, Phys. Rev. B: Condens. Matter
Mater. Phys., 2002, 65, 125408.
66 S. Jesse, A. P. Baddorf and S. V. Kalinin, Nanotechnology,
2006, 17, 1615–1628.
67 S. Jesse, B. J. Rodriguez, S. Choudhury, A. P. Baddorf,
I. Vrejoiu, D. Hesse, M. Alexe, E. A. Eliseev,
A. N. Morozovska, J. Zhang, L. Q. Chen and S. V. Kalinin,
Nat. Mater., 2008, 7, 209–215.
68 N. Balke, S. Jesse, A. N. Morozovska, E. Eliseev,
D. W. Chung, Y. Kim, L. Adamczyk, R. E. Garcia,
N. Dudney and S. V. Kalinin, Nat. Nanotechnol., 2010, 5,
749–754.
69 S. V. Kalinin, B. J. Rodriguez, J. Shin, S. Jesse, V. Grichko,
T. Thundat, A. P. Baddorf and A. Gruverman,
Ultramicroscopy, 2006, 106, 334–340.
70 S. V. Kalinin, B. J. Rodriguez, S. Jesse, T. Thundat and
A. Gruverman, Appl. Phys. Lett., 2005, 87, 3.
71 S. V. Kalinin, B. J. Rodriguez, S. Jesse, E. Karapetian,
B. Mirman, E. A. Eliseev and A. N. Morozovska, Annu. Rev.
Mater. Res., 2007, 37, 189–238.
72 S. Amemiya, A. J. Bard, F.-R. F. Fan, M. V. Mirkin and
P. R. Unwin, Annu. Rev. Anal. Chem., 2008, 1, 95–131.
73 A. J. Bard, F. R. F. Fan, J. Kwak and O. Lev, Anal. Chem.,
1989, 61, 132–138.
74 M. V. Mirkin and B. R. Horrocks, Anal. Chim. Acta, 2000,
406, 119–146.
75 J. V. Macpherson and P. R. Unwin, Anal. Chem., 2000, 72,
276–285.
76 Nanoelectrochemistry, ed. M. V. Mirkin and S. Amemiya,
CRC Press, 2015.
77 C. Kranz, G. Friedbacher and B. Mizaikoﬀ, Anal. Chem.,
2001, 73, 2491–2500.
78 A. Kueng, C. Kranz, A. Lugstein, E. Bertagnolli and
B. Mizaikoﬀ, Angew. Chem., Int. Ed., 2003, 42, 3238–3240.
79 J. V. Macpherson and P. R. Unwin, Anal. Chem., 2001, 73,
550–557.
80 M. A. Derylo, K. C. Morton and L. A. Baker, Langmuir, 2011,
27, 13925–13930.
81 A. Davoodi, J. Pan, C. Leygraf and S. Norgren, J. Electrochem.
Soc., 2008, 155, C211–C218.

7124 | Anal. Methods, 2015, 7, 7106–7127

Tutorial Review

82 B. Cappella and G. Dietler, Surf. Sci. Rep., 1999, 34, 1–104.
83 H. J. Butt, B. Cappella and M. Kappl, Surf. Sci. Rep., 2005, 59,
1–152.
84 M. Rief, H. Clausen-Schaumann and H. E. Gaub, Nat. Struct.
Biol., 1999, 6, 346–349.
85 Scanning Force Microscopy of Polymers, ed. H. Schonherr and
G. J. Vancso, Springer-Verlag, Heidelberg, 2010.
86 M. R. VanLandingham, J. S. Villarrubia, W. F. Guthrie and
G. F. Meyers, Macromol. Symp., 2001, 167, 15–43.
87 M. R. VanLandingham, J. Res. Natl. Inst. Stand. Technol.,
2003, 108, 249–265.
88 M. Stolz, R. Raiteri, A. U. Daniels, M. R. VanLandingham,
W. Baschong and U. Aebi, Biophys. J., 2004, 86, 3269–3283.
89 M. Rief, M. Gautel, F. Oesterhelt, J. M. Fernandez and
H. E. Gaub, Science, 1997, 276, 1109–1112.
90 M. Grandbois, M. Beyer, M. Rief, H. Clausen-Schaumann
and H. E. Gaub, Science, 1999, 283, 1727–1730.
91 A. Ebner, F. Kienberger, G. Kada, C. M. Stroh,
M. Geretschlager, A. S. M. Kamruzzahan, L. Wildling,
W. T. Johnson, B. Ashcro, J. Nelson, S. M. Lindsay,
H. J. Gruber and P. Hinterdorfer, ChemPhysChem, 2005, 6,
897–900.
92 P. Hinterdorfer, W. Baumgartner, H. J. Gruber, K. Schilcher
and H. Schindler, Proc. Natl. Acad. Sci. U. S. A., 1996, 93,
3477–3481.
93 G. J. Schutz, M. Sonnleitner, P. Hinterdorfer and
H. Schindler, Mol. Membr. Biol., 2000, 17, 17–29.
94 F. Kienberger, A. Ebner, H. J. Gruber and P. Hinterdorfer,
Acc. Chem. Res., 2006, 39, 29–36.
95 D. J. Mueller, J. Helenius, D. Alsteens and Y. F. Dufrene,
Nat. Chem. Biol., 2009, 5, 383–390.
96 E. L. Florin, V. T. Moy and H. E. Gaub, Science, 1994, 264,
415–417.
97 G. U. Lee, L. A. Chrisey and R. J. Colton, Science, 1994, 266,
771–773.
98 S. Rakshit, Y. Zhang, K. Manibog, O. Shafraz and
S. Sivasankar, Proc. Natl. Acad. Sci. U. S. A., 2012, 109,
18815–18820.
99 P. Hinterdorfer and Y. F. Dufrene, Nat. Methods, 2006, 3,
347–355.
100 A. Raman, J. Melcher and R. Tung, Nano Today, 2008, 3, 20–
27.
101 R. Garcia and E. T. Herruzo, Nat. Nanotechnol., 2012, 7,
217–226.
102 S. Zhang, H. Aslan, F. Besenbacher and M. D. Dong, Chem.
Soc. Rev., 2014, 43, 7412–7429.
103 E. T. Herruzo, A. P. Perrino and R. Garcia, Nat. Commun.,
2014, 5, 3126.
104 M. Penedo, A. Raman, S. Hormeno, I. Fernandez-Martinez,
M. Luna and F. Briones, Appl. Phys. Lett., 2014, 105, 173102.
105 R. D. Turner, J. Kirkham, D. Devine and N. H. Thomson,
Appl. Phys. Lett., 2009, 94, 043901.
106 A. Raman, S. Trigueros, A. Cartagena, A. P. Z. Stevenson,
M. Susilo, E. Nauman and S. A. Contera, Nat.
Nanotechnol., 2011, 6, 809–814.
107 H. Dietz, F. Berkemeier, M. Bertz and M. Rief, Proc. Natl.
Acad. Sci. U. S. A., 2006, 103, 12724–12728.

This journal is © The Royal Society of Chemistry 2015

58
View Article Online

Published on 06 July 2015. Downloaded by Purdue University on 01/05/2016 23:47:08.

Tutorial Review

108 L. Tetard, A. Passian, R. M. Lynch, B. H. Voy, G. Shekhawat,
V. Dravid and T. Thundat, Appl. Phys. Lett., 2008, 93,
133113.
109 R. Garcia and R. Proksch, Eur. Polym. J., 2013, 49, 1897–
1906.
110 C. Dietz, E. T. Herruzo, J. R. Lozano and R. Garcia,
Nanotechnology, 2011, 22, 125708.
111 D. Martinez-Martin, E. T. Herruzo, C. Dietz, J. GomezHerrero and R. Garcia, Phys. Rev. Lett., 2011, 106, 198101.
112 D. Platz, E. A. Tholen, D. Pesen and D. B. Haviland, Appl.
Phys. Lett., 2008, 92, 153106.
113 C. Hutter, D. Platz, E. A. Tholen, T. H. Hansson and
D. B. Haviland, Phys. Rev. Lett., 2010, 104, 050801.
114 B. J. Rodriguez, C. Callahan, S. V. Kalinin and R. Proksch,
Nanotechnology, 2007, 18, 475504.
115 S. Jesse, R. K. Vasudevan, L. Collins, E. Strelcov,
M. B. Okatan, A. Belianinov, A. P. Baddorf, R. Proksch
and S. V. Kalinin, Annu. Rev. Phys. Chem., 2014, 65, 519–536.
116 S. Husale, H. H. J. Persson and O. Sahin, Nature, 2009, 462,
1075–1138.
117 M. Dong, S. Husale and O. Sahin, Nat. Nanotechnol., 2009,
4, 514–517.
118 L. Tetard, A. Passian and T. Thundat, Nat. Nanotechnol.,
2010, 5, 105–109.
119 G. S. Shekhawat and V. P. Dravid, Science, 2005, 310, 89–92.
120 L. Tetard, A. Passian, K. T. Venmar, R. M. Lynch, B. H. Voy,
G. Shekhawat, V. P. Dravid and T. Thundat, Nat.
Nanotechnol., 2008, 3, 501–505.
121 A. Dazzi, R. Prazeres, E. Glotin and J. M. Ortega, Opt. Lett.,
2005, 30, 2388–2390.
122 A. Dazzi, C. B. Prater, Q. Hu, D. B. Chase, J. F. Rabolt and
C. Marcott, Appl. Spectrosc., 2012, 66, 1365–1384.
123 M. D. Sonntag, E. A. Pozzi, N. Jiang, M. C. Hersam and
R. P. van Duyne, J. Phys. Chem. Lett., 2014, 5, 3125–3130.
124 Z. D. Schultz, J. M. Marr and H. Wang, Nanophotonics, 2014,
3, 91–104.
125 L. Jiao, L. Zhang, X. Wang, G. Diankov and H. Dai, Nature,
2009, 458, 877–880.
126 N. Anderson, A. Hartschuh, S. Cronin and L. Novotny, J. Am.
Chem. Soc., 2005, 127, 2533–2537.
127 N. Anderson, A. Hartschuh and L. Novotny, Nano Lett.,
2007, 7, 577–582.
128 H. A. Bechtel, E. A. Muller, R. L. Olmon, M. C. Martin and
M. B. Raschke, Proc. Natl. Acad. Sci. U. S. A., 2014, 111,
7191–7196.
129 J. N. Chen, M. Badioli, P. Alonso-Gonzalez,
S. Thongrattanasiri, F. Huth, J. Osmond, M. Spasenovic,
A. Centeno, A. Pesquera, P. Godignon, A. Z. Elorza,
N. Camara, F. J. G. de Abajo, R. Hillenbrand and
F. H. L. Koppens, Nature, 2012, 487, 77–81.
130 O. S. Ovchinnikova, K. Kjoller, G. B. Hurst, D. A. Pelletier
and G. J. van Berkel, Anal. Chem., 2014, 86, 1083–1090.
131 V. F. Puntes, P. Gorostiza, D. M. Aruguete, N. G. Bastus and
A. P. Alivisatos, Nat. Mater., 2004, 3, 263–268.
132 Y. Martin and H. K. Wickramasinghe, Appl. Phys. Lett.,
1987, 50, 1455–1457.

This journal is © The Royal Society of Chemistry 2015

Analytical Methods

133 G. A. Medvedkin, T. Ishibashi, T. Nishi, K. Hayata,
Y. Hasegawa and K. Sato, Jpn. J. Appl. Phys., Part 2, 2000,
39, L949–L951.
134 D. Rugar, C. S. Yannoni and J. A. Sidles, Nature, 1992, 360,
563–566.
135 D. Rugar, R. Budakian, H. J. Mamin and B. W. Chui, Nature,
2004, 430, 329–332.
136 H. J. Mamin, M. Poggio, C. L. Degen and D. Rugar, Nat.
Nanotechnol., 2007, 2, 301–306.
137 C. L. Degen, M. Poggio, H. J. Mamin, C. T. Rettner and
D. Rugar, Proc. Natl. Acad. Sci. U. S. A., 2009, 106, 1313–
1317.
138 W. P. King, T. W. Kenny, K. E. Goodson, G. Cross,
M. Despont, U. Durig, H. Rothuizen, G. K. Binnig and
P. Vettiger, Appl. Phys. Lett., 2001, 78, 1300–1302.
139 B. A. Nelson and W. P. King, Rev. Sci. Instrum., 2007, 78,
023702.
140 K. L. Grosse, M.-H. Bae, F. Lian, E. Pop and W. P. King, Nat.
Nanotechnol., 2011, 6, 287–290.
141 K. L. Grosse, V. E. Dorgan, D. Estrada, J. D. Wood,
I. Vlassiouk, G. Eres, J. W. Lyding, W. P. King and E. Pop,
Appl. Phys. Lett., 2014, 105, 5.
142 K. L. Grosse, E. Pop and W. P. King, Rev. Sci. Instrum., 2014,
85, 094904.
143 O. S. Ovchinnikova, M. P. Nikiforov, J. A. Bradshaw, S. Jesse
and G. J. van Berkel, ACS Nano, 2011, 5, 5526–5531.
144 M. Lorenz, O. S. Ovchinnikova, V. Kertesz and G. J. van
Berkel, Anal. Chem., 2014, 86, 3146–3152.
145 Y. Fleming, T. Wirtz, U. Gysin, T. Glatzel, U. Wegmann,
E. Meyer, U. Maier and J. Rychen, Appl. Surf. Sci., 2011,
258, 1322–1327.
146 T. Wirtz, Y. Fleming, M. Gerard, U. Gysin, T. Glatzel,
E. Meyer, U. Wegmann, U. Maier, A. H. Odriozola and
D. Uehli, Rev. Sci. Instrum., 2012, 83, 063702.
147 T. Wirtz, Y. Fleming, U. Gysin, T. Glatzel, U. Wegmann,
E. Meyer, U. Maier and J. Rychen, Surf. Interface Anal.,
2013, 45, 513–516.
148 A. M. Moore and P. S. Weiss, Annu. Rev. Anal. Chem., 2008,
1, 857–882.
149 H. J. W. Zandvliet and A. van Houselt, Annu. Rev. Anal.
Chem., 2009, 2, 37–55.
150 M. H. Hamidian, A. R. Schmidt, I. A. Firmo, M. P. Allan,
P. Bradley, J. D. Garrett, T. J. Williams, G. M. Luke,
Y. Dubi, A. V. Balatsky and J. C. Davis, Proc. Natl. Acad.
Sci. U. S. A., 2011, 108, 18233–18237.
151 A. R. Schmidt, M. H. Hamidian, P. Wahl, F. Meier,
A. V. Balatsky, J. D. Garrett, T. J. Williams, G. M. Luke
and J. C. Davis, Nature, 2010, 465, 570–576.
152 A. M. Moore, S. Yeganeh, Y. X. Yao, S. A. Claridge,
J. M. Tour, M. A. Ratner and P. S. Weiss, ACS Nano, 2010,
4, 7630–7636.
153 M. Akai-Kasaya, K. Shimizu, Y. Watanabe, A. Saito, M. Aono
and Y. Kuwahara, Phys. Rev. Lett., 2003, 91, 4.
154 S. Folsch, P. Hyldgaard, R. Koch and K. H. Ploog, Phys. Rev.
Lett., 2004, 92, 4.
155 O. Wolf, M. Dasog, Z. Yang, I. Balberg, J. G. C. Veinot and
O. Millo, Nano Lett., 2013, 13, 2516–2521.

Anal. Methods, 2015, 7, 7106–7127 | 7125

59
View Article Online

Published on 06 July 2015. Downloaded by Purdue University on 01/05/2016 23:47:08.

Analytical Methods

156 Y. J. Song, K. Lee, S. H. Kim, B. Y. Choi, J. Yu and Y. Kuk,
Nano Lett., 2010, 10, 996–999.
157 S. Chi, S. Grothe, R. X. Liang, P. Dosanjh, W. N. Hardy,
S. A. Burke, D. A. Bonn and Y. Pennec, Phys. Rev. Lett.,
2012, 109, 5.
158 R. Decker, Y. Wang, V. W. Brar, W. Regan, H. Z. Tsai, Q. Wu,
W. Gannett, A. Zettl and M. F. Crommie, Nano Lett., 2011,
11, 2291–2295.
159 J. Repp, G. Meyer, S. M. Stojkovic, A. Gourdon and
C. Joachim, Phys. Rev. Lett., 2005, 94, 4.
160 P. Liljeroth, J. Repp and G. Meyer, Science, 2007, 317, 1203–
1206.
161 C. L. Chiang, C. Xu, Z. M. Han and W. Ho, Science, 2014,
344, 885–888.
162 R. C. Jaklevic and J. Lambe, Phys. Rev. Lett., 1966, 17, 1139–
1140.
163 W. Ho, J. Chem. Phys., 2002, 117, 11033–11061.
164 P. K. Hansma, Phys. Rep., 1977, 30, 145–206.
165 J. R. Hahn and W. Ho, J. Chem. Phys., 2009, 131, 044706.
166 J. I. Pascual, J. J. Jackiw, Z. Song, P. S. Weiss, H. Conrad and
H. P. Rust, Phys. Rev. Lett., 2001, 86, 1050–1053.
167 M. Lackinger, M. S. Janson and W. Ho, J. Chem. Phys., 2012,
137, 7.
168 M. M. Blake, S. U. Nanayakkara, S. A. Claridge,
L. C. Fernandez-Torres, E. C. H. Sykes and P. S. Weiss, J.
Phys. Chem. A, 2009, 113, 13167–13172.
169 B. Y. Choi, S. J. Kahng, S. Kim, H. Kim, H. W. Kim,
Y. J. Song, J. Ihm and Y. Kuk, Phys. Rev. Lett., 2006, 96,
156106.
170 T. Komeda, Prog. Surf. Sci., 2005, 78, 41–85.
171 M. Parschau, K. H. Rieder, H. J. Hug and K. H. Ernst, J. Am.
Chem. Soc., 2011, 133, 5689–5691.
172 Y. Sainoo, Y. Kim, T. Komeda, M. Kawai and H. Shigekawa,
Surf. Sci., 2003, 536, L403–L407.
173 K. Motobayashi, Y. Kim, R. Arafune, M. Ohara, H. Ueba and
M. Kawai, J. Chem. Phys., 2014, 140, 8.
174 B. C. Stipe, M. A. Rezaei and W. Ho, Science, 1998, 280,
1732–1735.
175 N. Lorente, M. Persson, L. J. Lauhon and W. Ho, Phys. Rev.
Lett., 2001, 86, 2593–2596.
176 Q. Huan, Y. Jiang, Y. Y. Zhang, U. Ham and W. Ho, J. Chem.
Phys., 2011, 135, 6.
177 A. S. Hallback, N. Oncel, J. Huskens, H. J. W. Zandvliet and
B. Poelsema, Nano Lett., 2004, 4, 2393–2395.
178 R. Giridharagopal, J. Zhang and K. F. Kelly, Rev. Sci.
Instrum., 2011, 82, 053710.
179 J. Lee, X. W. Tu and W. Ho, Nano Lett., 2005, 5, 2613–2617.
180 J. H. Worne, R. Giridharagopal, K. F. Kelly and D. Natelson,
Nano Res., 2008, 1, 341–350.
181 A. Hazarika, E. Peretz, V. Dikovsky, P. K. Santra,
R. Z. Shneck, D. D. Sarma and Y. Manassen, Surf. Sci.,
2014, 630, 89–95.
182 N. Agrait, A. L. Yeyati and J. M. van Ruitenbeek, Phys. Rep.,
2003, 377, 81–279.
183 S. J. van der Molen and P. Liljeroth, J. Phys.: Condens.
Matter, 2010, 22, 30.
184 F. Chen and N. J. Tao, Acc. Chem. Res., 2009, 42, 429–438.

7126 | Anal. Methods, 2015, 7, 7106–7127

Tutorial Review

185 X. L. Li, B. Q. Xu, X. Y. Xiao, X. M. Yang, L. Zang and
N. J. Tao, Faraday Discuss., 2006, 131, 111–120.
186 M. Brandbyge, J. Schiotz, M. R. Sorensen, P. Stoltze,
K. W. Jacobsen, J. K. Norskov, L. Olesen, E. Laegsgaard,
I. Stensgaard and F. Besenbacher, Phys. Rev. B: Condens.
Matter Mater. Phys., 1995, 52, 8499–8514.
187 B. Q. Xu and N. J. J. Tao, Science, 2003, 301, 1221–1223.
188 F. Chen, X. L. Li, J. Hihath, Z. F. Huang and N. J. Tao, J. Am.
Chem. Soc., 2006, 128, 15874–15881.
189 M. Kamenetska, M. Koentopp, A. C. Whalley, Y. S. Park,
M. L. Steigerwald, C. Nuckolls, M. S. Hybertsen and
L. Venkataraman, Phys. Rev. Lett., 2009, 102, 4.
190 X. Y. Xiao, B. Q. Xu and N. J. Tao, Nano Lett., 2004, 4, 267–
271.
191 B. Q. Xu and N. J. J. Tao, Science, 2003, 301, 1221–1223.
192 R. Wiesendanger, Rev. Mod. Phys., 2009, 81, 1495–1550.
193 M. Bode, Rep. Prog. Phys., 2003, 66, 523–582.
194 S. Loth, M. Etzkorn, C. P. Lutz, D. M. Eigler and
A. J. Heinrich, Science, 2010, 329, 1628–1630.
195 A. A. Khajetoorians, B. Baxevanis, C. Hubner, T. Schlenk,
S. Krause, T. O. Wehling, S. Lounis, A. Lichtenstein,
D. Pfannkuche, J. Wiebe and R. Wiesendanger, Science,
2013, 339, 55–59.
196 N. Atodiresei, J. Brede, P. Lazic, V. Caciuc, G. Hoﬀmann,
R. Wiesendanger and S. Blugel, Phys. Rev. Lett., 2010, 105,
066601.
197 J. E. Bickel, F. Meier, J. Brede, A. Kubetzka, K. von
Bergmann and R. Wiesendanger, Phys.Rev. B: Condens.
Matter Mater. Phys., 2011, 84, 6.
198 J. Brede, N. Atodiresei, S. Kuck, P. Lazic, V. Caciuc,
Y.
Morikawa,
G.
Hoﬀmann,
S.
Blugel
and
R. Wiesendanger, Phys. Rev. Lett., 2010, 105, 047204.
199 S. Krause, L. Berbil-Bautista, G. Herzog, M. Bode and
R. Wiesendanger, Science, 2007, 317, 1537–1540.
200 A. J. Heinrich, J. A. Gupta, C. P. Lutz and D. M. Eigler,
Science, 2004, 306, 466–469.
201 C. F. Hirjibehedin, C. P. Lutz and A. J. Heinrich, Science,
2006, 312, 1021–1024.
202 Y. J. Song, A. F. Otte, V. Shvarts, Z. Y. Zhao, Y. Kuk,
S. R. Blankenship, A. Band, F. M. Hess and J. A. Stroscio,
Rev. Sci. Instrum., 2010, 81, 33.
203 T. Zhang, N. Levy, J. Ha, Y. Kuk and J. A. Stroscio, Phys. Rev.
B: Condens. Matter Mater. Phys., 2013, 87, 6.
204 P. Messina, M. Mannini, A. Caneschi, D. Gatteschi,
L. Sorace, P. Sigalotti, C. Sandrin, S. Prato, P. Pittana and
Y. Manassen, J. Appl. Phys., 2007, 101, 053916.
205 C. Durkan and M. E. Welland, Appl. Phys. Lett., 2002, 80,
458–460.
206 L. Gorini, M. Fabrizioli, M. Mannini, L. Sorace and
A. Yakovenko, Inorg. Chim. Acta, 2008, 361, 4089–4093.
207 V. Mugnaini, M. Fabrizioli, I. Ratera, M. Mannini,
A. Caneschi, D. Gatteschi, Y. Manassen and J. Veciana,
Solid State Sci., 2009, 11, 956–960.
208 J. Stadler, T. Schmid and R. Zenobi, Nanoscale, 2012, 4,
1856–1870.
209 T. Schmid, L. Opilik, C. Blum and R. Zenobi, Angew. Chem.,
Int. Ed., 2013, 52, 5940–5954.

This journal is © The Royal Society of Chemistry 2015

60

View Article Online

Published on 06 July 2015. Downloaded by Purdue University on 01/05/2016 23:47:08.

Tutorial Review

210 E. A. Pozzi, M. D. Sonntag, N. Jiang, J. M. Klingsporn,
M. C. Hersam and R. P. van Duyne, ACS Nano, 2013, 7,
885–888.
211 C. Chen, N. Hayazawa and S. Kawata, Nat. Commun., 2014,
5, 5.
212 W. H. Zhang, B. S. Yeo, T. Schmid and R. Zenobi, J. Phys.
Chem. C, 2007, 111, 1733–1738.
213 J. Steidtner and B. Pettinger, Phys. Rev. Lett., 2008, 100, 4.
214 R. Zhang, Y. Zhang, Z. C. Dong, S. Jiang, C. Zhang,
L. G. Chen, L. Zhang, Y. Liao, J. Aizpurua, Y. Luo,
J. L. Yang and J. G. Hou, Nature, 2013, 498, 82–86.
215 M. D. Sonntag, J. M. Klingsporn, L. K. Garibay,
J. M. Roberts, J. A. Dieringer, T. Seideman, K. A. Scheidt,
L. Jensen, G. C. Schatz and R. P. van Duyne, J. Phys.
Chem. C, 2012, 116, 478–483.
216 N. Jiang, E. T. Foley, J. M. Klingsporn, M. D. Sonntag,
N. A. Valley, J. A. Dieringer, T. Seideman, G. C. Schatz,
M. C. Hersam and R. P. van Duyne, Nano Lett., 2012, 12,
5061–5067.

This journal is © The Royal Society of Chemistry 2015

Analytical Methods

217 J. M. Klingsporn, N. Jiang, E. A. Pozzi, M. D. Sonntag,
D. Chulhai, T. Seideman, L. Jensen, M. C. Hersam and
R. P. V. Duyne, J. Am. Chem. Soc., 2014, 136, 3881–3887.
218 M. Paulite, C. Blum, T. Schmid, L. Opilik, K. Eyer,
G. C. Walker and R. Zenobi, ACS Nano, 2013, 7, 911–920.
219 N. Shirato, M. Cummings, H. Kersell, Y. Li, B. Stripe,
D. Rosenmann, S. W. Hla and V. Rose, Nano Lett., 2014,
14, 6499–6504.
220 C. Blum, T. Schmid, L. Opilik, N. Metanis, S. Weidmann
and R. Zenobi, J. Phys. Chem. C, 2012, 116, 23061–23066.
221 T. Matsushima, T. Okuda, T. Eguchi, M. Ono, A. Harasawa,
T. Wakita, A. Kataoka, M. Hamada, A. Kamoshida,
Y. Hasegawa and T. Kinoshita, Rev. Sci. Instrum., 2004, 75,
2149–2153.
222 V. Rose and J. W. Freeland, 10th International Conference on
Synchrotron Radiation Instrumentation, Melbourne, 2009.
223 V. Rose, K. K. Wang, T. Y. Chien, J. Hiller, D. Rosenmann,
J. W. Freeland, C. Preissner and S. W. Hla, Adv. Funct.
Mater., 2013, 23, 2646–2652.

Anal. Methods, 2015, 7, 7106–7127 | 7127

